## NEW CRITICAL DENSITY IN METAL-INSULATOR TRANSITION, OBTAINED IN n(p)-TYPE DEGENERATE, Si(1-x)Ge(x)CRYSTALLINE ALLOY, AND ITS APPLICATIONS. (V)

Prof. Dr. Huynh Van Cong*

Université de Perpignan Via Domitia, Laboratoire de Mathématiques et Physique (LAMPS), EA 4217, Département de Physique, 52, Avenue Paul Alduy, F-66 860 Perpignan, France.


## ABTRACT

In $n(p)$-type degenerate $\quad \mathrm{X}(\mathrm{x}) \equiv\left[\mathrm{Si}_{1-\mathrm{x}}\left(\mathrm{Ge}_{\mathrm{x}}\right)\right]-$ crystalline alloy, $0 \leq x \leq 1$, by basing on the same physical model and treatment method, as used in our recent works. ${ }^{[1,2]}$ we will investigate (1)-the critical impurity densities in the Mott metal-insulator transition (MottMIT), $\mathrm{N}_{\mathrm{CDn}(\mathrm{CDp})}$, determined in Eq. (8), and the origin of this Mott's criterium, Eq. (8), being investigated in Eq. (9b), (2)-the density of electrons (holes) localized in the exponential conduction (valence)band tails (EBT), $\mathrm{N}_{\mathrm{CDn}\left(\mathrm{CD}_{\mathrm{p}}\right)}^{\mathrm{EBT}}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a}), \mathrm{x}}\right)$, given in Eq. (26), giving rise to: $N_{\operatorname{CDn}\left(\mathrm{CDp}_{\mathrm{p}}\right)}^{\mathrm{EBT}}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a}), \mathrm{x}}\right) \cong \mathrm{N}_{\mathrm{CDn}(\mathrm{CD})}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right)$, with a precision of the order of $2.89 \times 10^{-7}$, as observed in Tables 1 n and 1 p , which could be
concluded that $\mathbf{N}_{\text {CDn(CDp) }}$ is also the density of electrons (holes) localized in the EBT, and (3)-the optical band gap, $\mathrm{E}_{\mathrm{gn} 1(\mathrm{gp} 1)}\left(\mathrm{N}^{*}, \mathrm{r}_{\mathrm{d}(\mathrm{a}), \mathrm{x}, \mathrm{T})}\right.$, determined in Eq. (28), $\mathrm{N}^{*}\left(\mathrm{~N}, \mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right) \equiv \mathrm{N}-\mathrm{N}_{\mathrm{CDn}(\mathrm{NDP})} \quad$, showing that the numerical results of $\mathrm{E}_{\mathrm{gn} 1(\mathrm{gP} 1)}\left(\mathrm{N}^{*}, \mathrm{r}_{\mathrm{d}(\mathrm{a}), \mathrm{x}}=0, \mathrm{~T}=20 \mathrm{~K}\right)$ are in good agreement with experimental ones, obtained by Wagner and del Alamo (1988), with maximal relative deviations: $5.38 \%$ ( $9.07 \%$ ), and $2.06 \%(5.16 \%)$, as observed in Tables 2 n and 2 p ; further, for $\mathrm{x}(=0,0.5,1)$, the numerical results of $\mathrm{E}_{\mathrm{gn} 1(\mathrm{gp} 1)}\left(\mathrm{N}^{*}, \mathrm{r}_{\mathrm{d}(\mathrm{a}), \mathrm{x}}, \mathrm{T}=20 \mathrm{~K}\right)$ are given in Tables 3 n and 3 p .

KEYWORS: $\mathrm{Si}_{1-\mathrm{x}} \mathrm{Ge}_{\mathrm{x}}-$ crystalline alloy; critical impurity density in the Mott MIT; optical band gap.

## INTRODUCTION

By basing on the same intrinsic energy-band-structure parameters, physical model and treatment method, as used in our recent work, ${ }^{[1]}$ and also other works, ${ }^{[2-12]}$ we will investigate the critical impurity density in the metal-insulator transition (MIT), obtained in the $n(p)$-type degenerate $\mathrm{X}(\mathrm{x}) \equiv\left[\mathrm{Si}_{1-\mathrm{x}}\left(\mathrm{Ge}_{\mathrm{x}}\right)\right]$ crystalline alloy, $0 \leq \mathrm{x} \leq 1$, being due to the effects of the size of donor (acceptor) $\mathrm{d}(\mathrm{a})$-radius, $\mathrm{r}_{\mathrm{d}(\mathrm{a})}$, the x - concentration, and finally the high $\mathrm{d}(\mathrm{a})$-density, N , assuming that all the impurities are ionized even at $\mathrm{T}=0 \mathrm{~K}$. In such $\mathrm{n}(\mathrm{p})$-type degenerate crystalline alloy, we will determine.
(i)- the critical total impurity density $\mathrm{N}_{\mathrm{CDn}(\operatorname{CDp})}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right)$ in the Mott-MIT, in which the assumption of the one conduction (valence)-band was used, as that given in Eq. ${ }^{[8]}$ using an empirical Mott parameter $\mathrm{M}_{\mathrm{n}(\mathrm{p})}=0.25$, and the density of electrons (holes) localized in the exponential conduction(valence)-band tails (EBT), $\mathrm{N}_{\mathrm{CDn}\left(\mathrm{CDp}_{\mathrm{p}}\right)}^{\mathrm{EBT}}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right)$, as that given in Eq. ${ }^{[26]}$ with the use of the empirical Heisenberg parameter $\mathcal{H}_{\mathrm{n}(\mathrm{p})}(\mathrm{x})=0.47137$, as that given in Eq. ${ }^{[15]}$ according to: for given $\mathrm{r}_{\mathrm{d}(\mathrm{a})}$ and $\mathrm{x}, \mathrm{N}_{\mathrm{CDn}(\operatorname{CDp})}^{\mathrm{EBT}}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right) \cong \mathrm{N}_{\mathrm{CDn}\left(\mathrm{CDp}_{\mathrm{p}}\right)}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right)$, with a precision of the order of $2.89 \times 10^{-7}\left(2.88 \times 10^{-7}\right)$, as seen in Tables 1 n and 1 p , respectively, being more accurate compared with the corresponding ones $9.99 \times 10^{-6}\left(1.49 \times 10^{-5}\right)$, given in our recent work. ${ }^{[2]}$ in which the assumption of 3 -conduction bands and 2-valence bands was taken, and (ii)-the optical band gap $(\boldsymbol{O B G}), \mathrm{E}_{\mathrm{gn} 1(\mathrm{gp} 1)}\left(\mathrm{N}^{*}, \mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}, \mathrm{T}\right), \mathrm{N}^{*} \equiv \mathrm{~N}-\mathrm{N}_{\mathrm{CDn}(\mathrm{NDp})}$, as that given in Eq. ${ }^{[28]}$ in which the effective average number of equivalent conduction (valence)-band edges was used as: $\mathrm{g}_{\mathrm{c}}(\mathrm{x})=4 \times \mathrm{x}+6 \times(1-\mathrm{x}), \mathrm{gv}_{\mathrm{v}}(\mathrm{x})=2 \times \mathrm{x}+2 \times(1-\mathrm{x})$; then, its numerical results are reported in Tables $2 n, 2 p, 3 n$ and $3 p$, showing, in particular, in Tables $2 n$ and $2 p$, in which for $\mathrm{r}_{\mathrm{d}(\mathrm{a})} \equiv \mathrm{r}_{\mathrm{P}(\mathrm{B})}, x=0$ and $T=20 \mathrm{~K}$, the numerical results of $\mathrm{E}_{\mathrm{gn} 1(\mathrm{gp} 1)}$ are found to be in good agreement with the data, obtained by Wagner \& del Alamo (1988), with maximal relative deviations: $5.38 \%(9.07 \%)$, and $2.06 \%(5.16 \%)$, respectively.

In the following, we will determine those functions: $\mathrm{N}_{\mathrm{CDn}\left(\mathrm{CDP}_{\mathrm{p}}\right)}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{X}\right), \mathrm{N}_{\mathrm{CDn}\left(\mathrm{CDP}_{\mathrm{p}}\right)}^{\mathrm{EBT}}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right)$, and finally, $\mathrm{E}_{\mathrm{gn} 1(\mathrm{gp} 1)}\left(\mathrm{N}^{*}, \mathrm{r}_{\mathrm{d}(\mathrm{a}), \mathrm{x}}, \mathrm{T}\right)$.

## CRITICAL DENSITY IN THE MOTT MIT

Such the critical impurity density $N_{\operatorname{CDn}\left(\operatorname{CDP}_{p}\right)}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right)$, expressed as a function of $\mathrm{r}_{\mathrm{d}(\mathrm{a})}$ and x , is determined as follows.

## Effect of x-concentration

Here, the values of the intrinsic energy-band-structure parameters, such as: the unperturbed relative effective electron (hole) mass in conduction (valence) bands $\mathrm{m}_{\mathrm{c}(\mathrm{v})}(\mathrm{x}) / \mathrm{m}_{\mathrm{o}}, \mathrm{m}_{\mathrm{o}}$ being the electron rest mass, the reduced effective mass $m_{r}(x) / m_{c}$, the unperturbed relative dielectric static constant $\varepsilon_{0}(\mathrm{x})$, the intrinsic energy gap, $\mathrm{E}_{\mathrm{go}}(\mathrm{x})$
$\mathrm{m}_{\mathrm{c}}(\mathrm{x}) / \mathrm{m}_{\mathrm{o}}=0.12 \times \mathrm{x}+0.37353 \times(1-\mathrm{x}), \mathrm{m}_{\mathrm{v}}(\mathrm{x}) / \mathrm{m}_{\mathrm{o}}=0.3 \times \mathrm{x}+0.54038 \times(1-\mathrm{x})$,
$\mathrm{m}_{\mathrm{r}}(\mathrm{x}) / \mathrm{m}_{\mathrm{o}}=\frac{\mathrm{m}_{\mathrm{c}}(\mathrm{x}) \times \mathrm{m}_{\mathrm{v}}(\mathrm{x})}{\mathrm{m}_{\mathrm{c}}(\mathrm{x})+\mathrm{m}_{\mathrm{v}}(\mathrm{x})}$,
$\varepsilon_{0}(\mathrm{x})=15.8 \times \mathrm{x}+11.4 \times(1-\mathrm{x})$,
$\mathrm{E}_{\mathrm{go}}(\mathrm{x})$ in $\mathrm{eV}=0.7412 \times \mathrm{x}+1.17 \times(1-\mathrm{x})$, and the isothermal bulk modulus $\mathrm{B}_{\mathrm{do}(\mathrm{ao})}(\mathrm{x}) \equiv \frac{\mathrm{E}_{\mathrm{do}(\mathrm{ao})}(\mathrm{x})}{(4 \mathrm{x} / 3) \times\left(\mathrm{rdo}_{(\mathrm{ao})}\right)^{2}}$, determined at $\mathrm{r}_{\mathrm{d}(\mathrm{a})}=\mathrm{r}_{\mathrm{do}(\mathrm{ao})}=\mathrm{r}_{\mathrm{Si}(\mathrm{Si})}=0.117 \mathrm{~nm}(0.117 \mathrm{~nm})$.

Therefore, the effective donor (acceptor)-ionization energy $\mathrm{E}_{\mathrm{do}(\mathrm{ao})}(\mathrm{x})$ and the isothermal bulk modulus $\mathrm{B}_{\mathrm{do}(\mathrm{ao})}(\mathrm{x})$ are found to be given by:
$\mathrm{E}_{\mathrm{do}(\mathrm{ao})}(\mathrm{x})=\frac{13600 \times\left[\mathrm{m}_{\mathrm{c}(\mathrm{y}}(\mathrm{x}) / \mathrm{m}_{0}\right]}{\left[\mathrm{s}_{\mathrm{o}}(\mathrm{x})\right]^{2}} \mathrm{meV}$ and
$\mathrm{B}_{\mathrm{do}(\mathrm{ao})}(\mathrm{x}) \equiv \frac{\mathrm{E}_{\mathrm{do}(\mathrm{aaO})}(\mathrm{x})}{(4 \pi / 3) \times\left(\mathrm{rdo}_{\mathrm{do}(\mathrm{ao})}\right)^{2}}$.

## Effects of impurity size, with a given $x$

Here, one shows that the effects of the size of donor (acceptor) $d(a)$-radius, $r_{d(a)}$, and the $x$ concentration strongly affects the changes in all the energy-band-structure parameters, which can be represented by the effective relative static dielectric constant $\varepsilon\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right)$, as follows.

At $\mathrm{r}_{\mathrm{d}(\mathrm{a})}=\mathrm{r}_{\mathrm{do}(\mathrm{ao}) \text {, the needed boundary conditions are found to be, for the impurity-atom }}$ volume $\mathrm{V}=(4 \pi / 3) \times\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}\right)^{3}, \mathrm{~V}_{\mathrm{do}(\mathrm{ao})}=(4 \pi / 3) \times\left(\mathrm{r}_{\mathrm{do}(\mathrm{ao})}\right)^{3}$, for the pressure p , as: $\mathrm{p}_{\mathrm{o}}=0$, and for the deformation potential energy (or the strain energy) $\sigma$, as: $\sigma_{\circ}=0$. Further, the two important equations, used to determine the $\sigma$-variation: $\Delta \sigma \equiv \sigma-\sigma_{o}=\sigma$, are defined by: $\frac{d p}{d v}=\frac{B}{v}$ and $\mathrm{p}=-\frac{\mathrm{d} \sigma}{\mathrm{dv}}$. giving: $\frac{\mathrm{d}}{\mathrm{dv}}\left(\frac{\mathrm{d} \sigma}{\mathrm{dv}}\right)=\frac{\mathrm{B}}{\mathrm{v}}$. Then, by an integration, one gets:


Furthermore, we also shown that, as $\mathrm{r}_{\mathrm{d}(\mathrm{a})}>\mathrm{r}_{\mathrm{do}(\mathrm{ao})}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}<\mathrm{r}_{\mathrm{do}(\mathrm{ao})}\right)$, the compression (dilatation) gives rise to: the increase (the decrease) in the energy gap $\mathrm{E}_{\mathrm{gno}(\mathrm{gpo})}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right)$, and in the effective donor (acceptor)-ionization energy $\mathrm{E}_{\mathrm{d}(\mathrm{a})}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right)$ in the absolute values, being obtained from the effective Bohr model, and then such the compression (dilatation) is represented respectively by: $\pm\left[\Delta \sigma\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right)\right]_{\mathrm{n}(\mathrm{p})}$,
 for $\mathrm{r}_{\mathrm{d}(\mathrm{a})} \geq \mathrm{r}_{\mathrm{do}(\mathrm{ao})}$, and for $\mathrm{r}_{\mathrm{d}(\mathrm{a})} \leq \mathrm{r}_{\mathrm{do}(\mathrm{ao})}$,

Therefore, from above Equations (3) and (4), one obtains the expressions for relative dielectric constant $\varepsilon\left(r_{d(a)}, x\right)$ and energy band gap $E_{g n(\underline{p})}\left(r_{d(a)}, x\right)$, as:

 according to the increase in both $E_{g n g(p)}\left(r_{d(a)}, x\right)$ and $E_{d(a)}\left(r_{d(a)}, x\right)$, for a given $x$, and



$\leq 0$, (6)
Corresponding to the decrease in both $\mathrm{E}_{\mathrm{gn}(\underline{g} p)}\left(\mathrm{r}_{\mathrm{d}(a)}, \mathrm{x}\right)$ and $\mathrm{E}_{\mathrm{d}(a)}\left(\mathrm{r}_{\mathrm{d}(a)}, \mathrm{x}\right)$, for a given x .
Furthermore, the effective Bohr radius $\mathrm{a}_{\mathrm{Bn}(\mathrm{Bp})}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}\right)$ is defined by:
$\mathrm{a}_{\mathrm{Bn}(\mathrm{Bp})}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right) \equiv \frac{\mathrm{s}\left(\mathrm{rd}_{\mathrm{d}(\mathrm{g})} \mathrm{x}\right) \times \mathrm{h}^{2}}{\mathrm{~m}_{\mathrm{c}(\mathrm{m})}(\mathrm{x}) \times \mathrm{q}^{2}}=0.53 \times 10^{-8} \mathrm{~cm} \times \frac{\varepsilon\left(\mathrm{rd}_{\mathrm{d}} \mathrm{g}, \mathrm{x}\right)}{\mathrm{m}_{\mathrm{c}(\mathrm{v})}(\mathrm{x}) / \mathrm{m}_{\mathrm{d}}}$,

Where -q is the electron charge.
In the $\mathrm{n}(\mathrm{p})$-type degenerate $\mathrm{Si}_{1-\mathrm{x}} \mathrm{Ge}_{\mathrm{x}}$ - crystalline alloy, in which the assumption of one conduction (valence)-band is used, the critical total donor (acceptor)-density in the MottMIT, $\mathrm{N}_{\mathrm{CDn}\left(\mathrm{NDp}_{\mathrm{p}}\right)}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right)$, is determined by:
$N_{\operatorname{CDn}(\operatorname{CDp})}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right)^{1 / 3} \times \mathrm{a}_{\mathrm{Bn}(\mathrm{Bp})}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a}),}, \mathrm{x}\right) \simeq \mathrm{M}_{\mathrm{n}(\mathrm{p})}, \mathrm{M}_{\mathrm{n}(\mathrm{p})}=0.25$.

Eq. (8) is thus the Mott-criterium, used to determine $N_{C D n(C D p)}$, depending on the choice of empirical parameters, given in Eq. (7), such as: $\mathrm{m}_{\mathrm{c}(\mathrm{v})}(\mathrm{x})$ or $\varepsilon_{0}(\mathrm{x})$, so that the numerical results of $\mathrm{N}_{\mathrm{CDn}\left(\mathrm{CD}_{p}\right)}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right)$, being in good accordance with those, observed in experiments.

In the following, these obtained numerical results can also be justified by calculating those of the density of electrons (holes) localized in exponential conduction (valence)-band (EBT) tails, $\mathrm{N}_{\mathrm{CDn}(\mathrm{CDp})}^{\mathrm{EBT}}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right)$.
$\mathbf{N}_{\text {CDn(CDp })}^{\mathrm{EBT}}\left(\mathbf{r}_{\mathrm{d}(\mathrm{a})}, \mathbf{x}\right)$ - Expression
In order to determine $\mathrm{N}_{\operatorname{CDn}\left(\mathrm{CDp}_{\mathrm{p}}\right)}^{\mathrm{EBP}}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right)$, we first present our physical model and also our mathematical methods, in such the assumption of one conduction (valence)-band.

## Physical model (Origin of the Mott's criterium)

In the $\mathrm{n}(\mathrm{p})$-type degenerate $\mathrm{Si}_{1-\mathrm{x}} \mathrm{Ge}_{\mathrm{x}}$ - crystalline alloy, if denoting the Fermi wave number by: $\mathrm{k}_{\mathrm{Fn}(\mathrm{Fp})}(\mathrm{N}) \equiv\left(3 \pi^{2} \mathrm{~N}\right)^{1 / 3}$, N being the total impurity density with an assumption that all the impurities are ionized even at temperature $\mathrm{T}=0 \mathrm{~K}$, the reduced effective Wigner-Seitz (WS) radius $\mathrm{r}_{\mathrm{sn}(\mathrm{sp})}$, characteristic of interactions, is defined by:

explaining thus the origin of the excellent Mott's criterium.

Here, one notes that, at $\mathrm{N}=\mathrm{N}_{\mathrm{CDn}\left(\operatorname{cDp}_{\mathrm{p}}\right)}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right), \quad \mathrm{r}_{\mathrm{sn}(\mathrm{sp})}\left(\mathrm{N}_{\mathrm{CDn}\left(\operatorname{CDp}_{\mathrm{p}}\right)}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right), \mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right)=$ 2.4852548, being determined from Eq. (9a), as those also observed in Tables 1 n and 1 p in Appendix 1. In other words, the above Mott's criterium (8) can also be explained by Eq. (9a), as:
$\mathrm{N}_{\mathrm{CDn}(\operatorname{CDp})}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a}),}, \mathrm{x}\right)^{1 / 3} \times \mathrm{a}_{\mathrm{Bn}(\mathrm{Bp})}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a}), \mathrm{x})}=\left(\frac{3}{4 \pi}\right)^{1 / 3} \times \frac{1}{2.4852548}=0.2496124=(\mathrm{WS})_{\mathbf{n}(\mathrm{p})} \simeq \mathbf{M}_{\mathrm{n}(\mathrm{p})}=\right.$ 0.25 , with a relative deviation $\left(=1.5504 \times 10^{-3}\right)$.

Then, the ratio of the inverse effective screening length $\mathrm{k}_{\mathrm{sn}(\mathrm{sp})}$ ) to Fermi wave number $\mathrm{k}_{\mathrm{Fn}(\mathrm{kp})}$ is defined by

These ratios, $\mathrm{R}_{\mathrm{snTP}(\mathrm{spTF})}$ and $\mathrm{R}_{\mathrm{snWS}}(\mathrm{spWS})$, are determined in the following.

First, for $\mathrm{N} \gg \mathrm{N}_{\mathrm{CDn}(\mathrm{NDp})}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right)$, according to the Thomas-Fermi (TF)-approximation, the ratio $\mathrm{R}_{\mathrm{snTP}(\operatorname{snTF})}$ is reduced to

being proportional to $\mathrm{N}^{-1 / 6}$.
Secondly, $\mathrm{N}<\mathrm{N}_{\mathrm{CDn}(\mathrm{NDp})}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}\right)$, according to the Wigner-Seitz (WS)-approximation, the ratio $\mathrm{R}_{\mathrm{snWS}(\mathrm{spWS})}$ is reduced to [3]:

(12) where $\mathrm{E}_{\mathrm{CB}}\left(\mathrm{N}, \mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right)$ is the majority-carrier correlation energy (CE), being determined by

So, $n(p)$-type degenerate $X(x)$ - crystalline alloys, the physical conditions are found to be given by :

Here, $\pm \mathrm{E}_{\mathrm{Fn}(\mathrm{Pp})}$ is the Fermi energy at 0 K , and $\eta_{\mathrm{n}(\mathrm{p})}$ is defined in next Eq. (15), as:
$\pm \mathrm{E}_{\mathrm{Fn}(\mathrm{Fp})}(\mathrm{N}, \mathrm{x})=\frac{\hbar^{2} \times \mathrm{k}_{\mathrm{Ffn}(\mathrm{Fp})}(\mathrm{N})^{2}}{2 \times \mathrm{m}_{\mathrm{c}(\mathrm{v})}(\mathrm{x})} \geq 0, \eta_{\mathrm{n}(\mathrm{p})}\left(\mathrm{N}, \mathrm{r}_{\mathrm{d}(\mathrm{a})} \mathrm{x}\right)=\frac{\sqrt{2 \pi \mathrm{~N}}}{\mathrm{~g}\left(\mathrm{rd}_{\mathrm{d}(\mathrm{g})} \mathrm{x}\right)} \times \mathrm{q}^{2} \mathrm{k}_{\mathrm{sn}(\mathrm{sp})}^{-1 / 2}$.
Then, the total screened Coulomb impurity potential energy due to the attractive interaction between an electron (hole) charge, $-\mathrm{q}(+\mathrm{q})$, at position $\overrightarrow{\mathrm{r}}$, and an ionized donor (ionized acceptor) charge: $+\mathrm{q}(-\mathrm{q})$ at position $\overrightarrow{\mathrm{R}_{\mathrm{j}}}$, randomly distributed throughout $\mathrm{X}(\mathrm{x})$ - crystalline alloys, is defined by:

$$
\begin{equation*}
\mathrm{V}(\mathrm{r}) \equiv \sum_{\mathrm{j}=1}^{\mathbb{N}} \mathrm{v}_{\mathrm{j}}(\mathrm{r})+\mathrm{V}_{\mathrm{o}} \tag{14}
\end{equation*}
$$

where $\mathbb{N}$ is the total number of ionized donors (acceptors), $\mathrm{V}_{\mathrm{o}}$ is a constant potential energy, and the screened Coulomb potential energy $\mathrm{v}_{\mathrm{j}}(\mathrm{r})$ is defined as:

where $\mathrm{k}_{\mathrm{gn}(\mathrm{sp})}$ is the inverse screening length determined in Eq. (11).
Further, using a Fourier transform, the $v_{j}$-representation in wave vector $\vec{k}$-espace is given by $\mathrm{v}_{\mathrm{j}}(\mathrm{k})=-\frac{\mathrm{q}^{2}}{\mathrm{~g}\left(\mathrm{rd}_{\mathrm{d}(\mathrm{a})}\right)} \times \frac{4 \pi}{\Omega} \times \frac{1}{\mathrm{k}^{2}+\mathrm{k}_{\mathrm{sn}(\mathrm{sp})}^{2}}$,
where $\Omega$ is the total $\mathrm{X}(\mathrm{x})$ - crystalline alloy volume.
Then, the effective auto-correlation function for potential fluctuations, $W_{\mathrm{n}(\mathrm{p})}\left(\mathrm{v}_{\mathrm{n}(\mathrm{p})}, \mathrm{N}, \mathrm{r}_{\mathrm{d}(\mathrm{g})}\right) \equiv\left\langle\mathrm{V}(\mathrm{r}) \mathrm{V}\left(\mathrm{r}^{\prime}\right)\right\rangle$, was determined, $[4,5]$ as :

$v_{\mathrm{n}(\mathrm{p})}(\mathrm{E}, \mathrm{N}, \mathrm{x}) \equiv \frac{\mp \mathrm{E}}{\mathrm{IE}_{\mathrm{Fno}(\mathrm{Fpo})}(\mathrm{N}, \mathrm{x})}, \mathcal{H}_{\mathrm{n}(\mathrm{p})}=0.47137$.
Here, E is the total electron energy, and the empirical Heisenberg parameter $\mathcal{H}_{\mathrm{n}(\mathrm{p})}=0.47137$ was chosen above such that the determination of the density of electrons localized in the conduction(valence)-band tails will be accurate, noting that as $\mathrm{E} \rightarrow \pm \infty,\left|v_{\mathrm{n}(\mathrm{p})}\right| \rightarrow \infty$, and therefore, $W_{n(p)} \rightarrow \eta_{\operatorname{ng}(p)}^{2}$.

In the following, we will calculate the ensemble average of the function: $(E-V)^{a-\frac{1}{2}} \equiv E_{k}^{a-\frac{1}{2}}$, for $\mathrm{a} \geq 1, \mathrm{E}_{\mathrm{k}} \equiv \frac{\hbar^{2} \times \mathrm{k}^{2}}{2 \times \mathrm{m}_{\mathrm{c}(\mathrm{y})}(\mathrm{x})}$ being the kinetic energy of the electron (hole), and $V(\mathrm{r})$ determined in Eq. (16), by using the two following integration methods, which strongly depend on $W_{\mathrm{n}(\mathrm{p})}\left(v_{\mathrm{n}(\mathrm{p})}, \mathrm{N}, \mathrm{r}_{\mathrm{d}(\mathrm{g})}, \mathrm{x}\right)$.

## MATHEMATICAL METHODS

## Kane integration method (KIM)

Here, the effective Gaussian distribution probability is defined by:
$\mathrm{P}(\mathrm{V}) \equiv \frac{1}{\sqrt{2 \pi W_{\mathrm{n}(\mathrm{p})}}} \times \exp \left[\frac{-\mathrm{V}^{\mathrm{x}}}{2 \mathrm{~W}_{\mathrm{n}(\mathrm{p})}}\right]$.
So, in the Kane integration method, the Gaussian average of $(E-V)^{a-\frac{1}{2}} \equiv E_{k}^{a-\frac{1}{2}}$ is defined by $\left\langle(E-V)^{a-\frac{1}{2}}\right\rangle_{\mathrm{KMM}} \equiv\left\langle\mathrm{E}_{\mathrm{k}}^{\mathrm{a}-\frac{1}{2}}\right\rangle_{\mathrm{KIM}}=\int_{-\infty}^{\mathrm{E}}(\mathrm{E}-\mathrm{V})^{\mathrm{a}-\frac{1}{2}} \times P(\mathrm{~V}) \mathrm{dV}$, for $\mathrm{a} \geq 1$.
Then, by variable changes: $s=(E-V) / \sqrt{W_{n(p)}}$ and $\mathrm{y}=\mp \mathrm{E} / \sqrt{W_{\mathrm{n}(\mathrm{p})}} \equiv \frac{ \pm \mathrm{E}_{\mathrm{Fn}(\mathrm{Fp})}}{\eta_{\mathrm{n}(\mathrm{p})}} \times v_{\mathrm{n}(\mathrm{p})} \times \exp \left(\frac{\mathfrak{F}_{\mathrm{n}(\mathrm{p})} \times \mathrm{R}_{\mathrm{nn}(\mathrm{gp})}}{4 \times \sqrt{\left|v_{\mathrm{n}(\mathrm{p})}\right|}}\right)$, and using an identity:
$\int_{0}^{\infty} s^{\mathrm{a}-\frac{1}{2}} \times \exp \left(-y s-\frac{\mathrm{s}^{2}}{2}\right) d s \equiv \Gamma\left(\mathrm{a}+\frac{1}{2}\right) \times \exp \left(\mathrm{y}^{2} / 4\right) \times \mathrm{D}_{-\mathrm{a}-\frac{1}{2}}(\mathrm{y})$,
where $D_{-a-\frac{1}{2}}(y)$ is the parabolic cylinder function and $\Gamma\left(a+\frac{1}{2}\right)$ is the Gamma function, one thus has
$\left(\mathrm{E}_{\mathrm{k}}^{\mathrm{a}-\frac{1}{2}}\right\rangle_{\mathrm{KIM}}=\frac{\exp \left(-y^{2} / 4\right) \times W_{n(p)}^{\frac{2 \mathrm{a}-1}{4}}}{\sqrt{2 \pi}} \times \Gamma\left(\mathrm{a}+\frac{1}{2}\right) \times \mathrm{D}_{-\mathrm{a}-\frac{1}{2}}(\mathrm{y})=\frac{\exp \left(-y^{2} / 4\right) \times \eta_{n(p)}^{a-\frac{1}{2}}}{\sqrt{2 \pi}} \times \exp \left(-\frac{\mathfrak{r}_{n(p)} \times \mathrm{R}_{\operatorname{snn}(\mathrm{gp})} \times(2 \mathrm{a}-1)}{8 \times \sqrt{\left|v_{\mathrm{n}(p)}\right|}}\right) \times$
$\Gamma\left(a+\frac{1}{2}\right) \times D_{-a-\frac{1}{2}}(y)$

## Feynman path-integral method (FPIM)

Here, the ensemble average of $(E-V)^{a-\frac{1}{2}} \equiv E_{k}^{a-\frac{1}{2}}$ is defined by $\left\langle(E-V)^{a-\frac{1}{2}}\right\rangle_{\text {PPIM }} \equiv\left\langle E_{k}^{a-\frac{1}{2}}\right\rangle_{\text {PPIM }} \equiv \frac{\hbar^{a}-\frac{1}{2}}{2^{\mathrm{B} / 2} \times \sqrt{2 \pi}} \times \frac{\Gamma\left(\mathrm{a}+\frac{1}{2}\right)}{\Gamma\left(\frac{\mathrm{s}}{2}\right)} \times \int_{-\infty}^{\infty}(\mathrm{it})^{-\mathrm{a}-\frac{1}{2}} \times \exp \left\{\frac{i \mathrm{Et}}{\frac{1}{\hbar}}-\frac{\left(\mathrm{t} \sqrt{W_{n(p)}}\right)^{2}}{2 \hbar^{2}}\right\} d t, i^{2}=-1$, noting that as $a=1$, (it) $)^{-\frac{\pi}{2}} \times \exp \left\{-\frac{\left(\mathrm{t} \sqrt{W_{p}}\right)^{2}}{2 \hbar^{2}}\right\}$ is found to be proportional to the averaged Feynman propagator given the dense donors (acceptors). Then, by variable changes: $\mathrm{t}=\frac{\mathrm{n}}{\sqrt{W_{\mathrm{n}(\mathrm{p})}}} \quad$ and $\quad \mathrm{y}=\mp \mathrm{E} / \sqrt{W_{\mathrm{n}(\mathrm{p})}} \equiv \frac{ \pm \mathrm{E}_{\mathrm{Fn}(\mathrm{Fp})}}{\eta_{\mathrm{n}(\mathrm{p})}} \times v_{\mathrm{n}(\mathrm{p})} \times \exp \left(\frac{\Re_{\mathrm{n}(\mathrm{p})} \times \mathrm{R}_{\mathrm{snn}(\mathrm{pp})}}{4 \times \sqrt{\left|v_{\mathrm{n}(\mathrm{p})}\right|}}\right)$, for $\mathrm{n}(\mathrm{p})$-type respectively, and then using an identity
$\int_{-\infty}^{\infty}(\text { is })^{-a-\frac{1}{2}} \times \exp \left\{\right.$ iys $\left.-\frac{\mathrm{s}^{2}}{2}\right\} \mathrm{ds} \equiv 2^{3 / 2} \times \Gamma(3 / 2) \times \exp \left(-y^{2} / 4\right) \times D_{-a-\frac{1}{2}}(y)$,
one finally obtains: $\left\langle\mathrm{E}_{\mathrm{k}}^{\mathrm{a}-\frac{1}{2}}\right\rangle_{\mathrm{FPIM}} \equiv\left\langle\mathrm{E}_{\mathrm{k}}^{\mathrm{a}-\frac{1}{2}}\right\rangle_{\mathrm{KIM}},\left\langle\mathrm{E}_{\mathrm{k}}^{\mathrm{a}-\frac{1}{2}}\right\rangle_{\mathrm{KIM}}$ being determined in Eq. (16).
In the following, with the use of asymptotic forms for $\mathrm{D}_{-\mathrm{a}-\frac{1}{2}}(\mathrm{y})$, those given for $\left\langle(\mathrm{E}-\mathrm{V})^{\mathrm{a}-\frac{1}{2}}\right\rangle_{\mathrm{KIM}}$ can be obtained in the two following cases.

## First case: $\boldsymbol{n}$-type ( $\mathrm{E} \geq 0$ ) and p-type ( $\mathrm{E} \leq 0$ )

As $\mathrm{E} \rightarrow \pm \infty$, one has: $\mathrm{v}_{\mathrm{n}(\mathrm{p})} \rightarrow \mp \infty$ and $\mathrm{y} \rightarrow \mp_{\infty}$. In this case, one gets: $D_{-a-\frac{1}{2}}(y \rightarrow \mp \infty) \approx \frac{\sqrt{2 \pi}}{r\left(a+\frac{1}{2}\right)} \times \mathrm{e}^{\frac{y^{2}}{4}} \times(\mp y)^{a-\frac{1}{2}}$, and therefore from Eq. (16), one gets:

$$
\begin{equation*}
\left\langle\mathrm{E}_{\mathrm{k}}^{\mathrm{a}-\frac{1}{2}}\right\rangle_{\mathrm{KIM}} \approx \mathrm{E}^{\mathrm{a}-\frac{1}{2}} \tag{17}
\end{equation*}
$$

Further, as $\mathrm{E} \rightarrow \pm 0$, one has: $v_{\mathrm{n}(\mathrm{p})} \rightarrow \mp 0$ and $\mathrm{y} \rightarrow \mp 0$. So, one obtains:

Therefore, as $\mathrm{E} \rightarrow \pm 0$, from Eq. (16), one gets: $\left\langle\mathrm{E}_{\mathrm{k}}^{\mathrm{a}-\frac{1}{2}}\right\rangle_{\mathrm{KIM}} \rightarrow 0$.
Thus, in this case, one gets
$\left\langle\mathrm{E}_{\mathrm{k}}^{\mathrm{a}-\frac{1}{2}}\right\rangle_{\mathrm{KIM}} \cong \mathrm{E}^{\mathrm{a}-\frac{1}{2}}$.

Second case: $n$-type-case ( $\mathrm{E} \leq 0$ ) and p-type-case ( $\mathrm{E} \geq 0$ )
As $E \rightarrow \mp 0$, one has: $\left(y, v_{n(p)}\right) \rightarrow \pm 0$, and by putting $f(a) \equiv \frac{\eta_{n}-\frac{1}{2}}{\sqrt{2 \pi}} \times \Gamma\left(a+\frac{1}{2}\right) \times \beta(a)$, Eq. (18) yields

Further, as $\mathrm{E} \rightarrow \mp \infty$, one has: $\left(\mathrm{y}, \mathrm{v}_{\mathrm{n}(\mathrm{p})}\right) \rightarrow \pm \infty$. Thus, one gets: $D_{-a-\frac{1}{2}}(y \rightarrow \pm \infty) \approx y^{-a-\frac{1}{2}} \times e^{-\frac{J^{2}}{4}} \rightarrow 0$.

Therefore, from Eq. (16), one gets

noting that $\beta(\mathrm{a})=\frac{\sqrt{\pi}}{2^{\frac{2 \mathrm{a}}{4}+1} \mathrm{C}\left[\frac{\sum_{2}}{2}+\frac{3}{4}\right.}$, being equal to: $\frac{\sqrt{\pi}}{2^{\frac{8}{\pi}} \times \Gamma(5 / 4)}$ for $\mathrm{a}=1$, and $\frac{\sqrt{\pi}}{2^{8 / 2}}$ for $\mathrm{a}=5 / 2$.
It should be noted that those ratios: $\frac{\left\{\mathbb{E}_{\mathrm{k}}^{2 \mathrm{z}} \mathrm{T}_{\rangle_{\mathrm{K}}}^{-\frac{1}{\mathrm{~K} M}}\right.}{\mathrm{f}_{(\mathrm{a})}}$, obtained in Equations (20) and (21), can be taken in an approximate form as
$F_{n_{(p)}}\left(v_{n(p)}, N, r_{d(a)}, X, a\right)=K_{n(p)}\left(v_{n(p)}, N, r_{d(a)}, X, a\right)+\left[H_{n(p)}\left(v_{n(p)}, N, r_{d(a)}, X, a\right)-K_{n(p)}\left(v_{n(p)}, N, r_{d(a)}, X, a\right)\right] \times$
$\exp \left[-c_{1} \times\left(A_{n(p)} v_{n(p)}\right)^{c_{2}}\right]$
so that: $\quad F_{n(p)}\left(v_{n(p)}, N, r_{d(a)}, X, a\right) \rightarrow H_{n(p)}\left(v_{n(p)}, N, r_{d(a)}, x, a\right) \quad$ for $\quad 0 \leq v_{n} \leq 16$, and $F_{n(p)}\left(v_{n(p)}, N, r_{d(a)}, X, a\right) \rightarrow K_{n(p)}\left(v_{n(p)}, N, r_{d(a)}, x, a\right)$ for $v_{n(p)} \geq 16$. Here, the constants $c_{1}$ and $c_{2}$ may be respectively chosen as: $c_{1}=10^{-40}$ and $c_{2}=80$, as $a=1$, being used to determine the critical density of electrons (holes) localized in the exponential conduction(valence) bandtails (EBT), $\mathrm{N}_{\mathrm{CDn}\left(\mathrm{CDp}_{\mathrm{p}}\right)}^{\mathrm{EBT}}\left(\mathrm{N}, \mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right)$, given in the following.

Here, by using Eq. (18) for $\mathrm{a}=1$, the density of states $\mathcal{D}(\mathrm{E})$ is defined by:

$$
\begin{equation*}
\left(\mathcal{D}\left(\mathrm{E}_{\mathrm{k}}\right)\right\rangle_{\mathrm{KIM}} \equiv \frac{1}{2 \pi^{2}}\left(\frac{2 m_{\mathrm{k}(\mathbb{V}}}{\hbar^{2}}\right)^{\frac{3}{2}} \times\left\langle\mathrm{E}_{\mathrm{k}}^{\frac{1}{2}}\right\rangle_{\mathrm{KIM}}=\frac{1}{2 \pi^{2}}\left(\frac{2 m_{\mathrm{LV}}}{\hbar^{2}}\right)^{\frac{3}{2}} \times \frac{\exp \left(-\frac{\mathrm{z}^{2}}{4}\right) \times W_{\pi}^{\frac{2}{4}}}{\sqrt{2 \pi}} \times \Gamma\left(\frac{3}{2}\right) \times \mathrm{D}_{-\frac{3}{2}}(\mathrm{y})=\mathcal{D}(\mathrm{E}) . \tag{23}
\end{equation*}
$$

Going back to the functions: $H_{n}, K_{n}$ and $F_{n}$, given respectively in Equations (20-22), in which the factor $\frac{\sum_{\mathrm{E}}^{\left.\frac{1}{2}\right)_{k M M}}}{\mathrm{f}(\mathrm{a}=1)}$ is now replaced by

$\beta(\mathrm{a}=1)=\frac{\sqrt{\pi}}{2 \mathrm{a} \times \Gamma(5 / 4)}$.
Therefore, $\mathrm{N}_{\mathrm{CDn}(\mathrm{CDp})}^{\mathrm{EBT}}\left(\mathrm{N}, \mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right)$ can be defined by: $\mathrm{N}_{\mathrm{CDn}\left(\mathrm{CDP}_{\mathrm{p}}\right)}^{\mathrm{EBT}}\left(\mathrm{N}, \mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right)=\int_{-\infty}^{\mathrm{U}} \mathcal{D}(\mathrm{E} \leq 0) \mathrm{dE}$,

where
$I_{n(p)} \equiv \int_{16}^{\infty} \beta(a=1) \times K_{n(p)}\left(v_{n(p)}, N, r_{d(a)}, X, a=1\right) d v_{n(p)}=\int_{16}^{\infty} e^{\frac{-\left(A_{n(p)} \times v_{n(p)}\right)^{2}}{z}} \times\left(A_{n(p)} v_{n(p)}\right)^{-3 / 2} d v_{n(p)}$.
Then, by another variable change: $t=\left[A_{n(p)} v_{n(p)} / \sqrt{2}\right]^{2}$, the integral $I_{n(p)}$ yields
$I_{n(p)}=\frac{1}{2^{5 / 4} A_{n(p)}} \times \int_{z_{n(p)}}^{\infty} t^{\mathrm{b}-1} \mathrm{e}^{-\mathrm{t}} \mathrm{dt} \equiv \frac{\mathrm{r}\left(\mathrm{p} \mathrm{z}_{\mathrm{n}(\mathrm{p})}\right)}{\mathrm{a}^{5} / 4 \times \mathrm{A}_{\mathrm{n}(\mathrm{p})}}$, where $\mathrm{b}=-1 / 4, \quad \mathrm{z}_{\mathrm{n}(\mathrm{p})}=\left[16 \mathrm{~A}_{\mathrm{n}(\mathrm{p})} / \sqrt{2}\right]^{2}$, and
$\Gamma\left(\mathrm{b}, \mathrm{z}_{\mathrm{n}(\mathrm{p})}\right)$ is the incomplete Gamma function, defined by:
$\Gamma\left(\mathrm{b}, \mathrm{z}_{\mathrm{n}(\mathrm{p})}\right) \approx \mathrm{z}_{\mathrm{n}(\mathrm{p})}^{\mathrm{b}-1} \times \mathrm{e}^{-z_{\mathrm{n}(\mathrm{p})}}\left[1+\sum_{\mathrm{j}=1}^{16} \frac{(\mathrm{~b}-1)(\mathrm{b}-2) \ldots(\mathrm{b}-\mathrm{j})}{\mathrm{z}_{\mathrm{n}(\mathrm{p})}^{\mathrm{j}}}\right]$.

Finally, Eq. (25) now yields

$$
\begin{align*}
& \text { 1) } \left.d v_{n(p)}+\frac{\Gamma\left(b, z_{n(p)}\right)}{2^{5} / 4 \times A_{n(p)}}\right\} \tag{26}
\end{align*}
$$

Being the density of electrons (holes) localized in the EBT, respectively.

In $n(p)$-type degenerate $X(x)$ - crystalline alloys, the numerical results of
 evaluated using Eq. (26), are given in following Tables 1n and 1p in Appendix 1, in which those of other functions such as: $\mathrm{B}_{\mathrm{do}(\mathrm{ao})}, \varepsilon, \mathrm{E}_{\mathrm{gno}(\mathrm{gpo})}, \mathrm{N}_{\mathrm{CDn}\left(\mathrm{CDp}_{\mathrm{p}}\right)}$, and $\mathrm{N}_{\mathrm{CDn}\left(\mathrm{CDp}_{\mathrm{p}}\right)}^{\mathrm{EBT}}$ are computed, using Equations (2), (5), (6), (8) and (26), respectively, noting that the relative deviations in absolute values are defined by: $|\mathrm{RD}| \equiv\left|1-\frac{\mathrm{N}_{\mathrm{EEE}}^{\mathrm{EET}\left(\mathrm{CDP}_{p}\right)}}{\mathrm{N}_{\mathrm{CDn}(\mathrm{CDP})} \mid}\right|$, giving rise to the maximal values of $|R D|:|R D|_{M a x}\left(=2.89 \times 10^{-7}\right.$ and $\left.2.88 \times 10^{-7}\right)$, respectively.

## Tables 1n and 1p in Appendix 1.

Table 1n. The numerical results of $B_{d o}, \varepsilon, E_{g n o}, N_{C D n}$, and $N_{C D n}^{E B T}$ are computed, using Equations (2), (5), (6), (8), and (26), respectively, noting that the relative deviations in absolute values are defined by: $|R D| \equiv\left|1-\frac{N_{N D \pi}^{E D T}}{N_{C D n}}\right|$, giving rise to a maximal value of $|R D|_{\text {Max }}\left(=\mathbf{2 . 8 9} \times \mathbf{1 0}^{-\mathbf{7}}\right)$. Here, the value of the effective reduced Wigner-Seitz radius, obtained in Eq. (9a): at $N=N_{C D n}\left(r_{d}, x\right), r_{s n}\left(N_{C D n}\left(r_{d}, x\right), r_{d}, x\right)=2.4852548$. Further, we obtain, at $\mathrm{x}=0$ and $r_{d}=r_{p}: N_{C D n}^{E B T}\left(r_{d}, x\right)=3.5201415 \times 10^{18} \mathrm{~cm}^{-3}$, in good accordance with that $\left(=3.52 \times 10^{18} \mathrm{~cm}^{-3}\right)$, observed in the $n$-type Si-crystal [10, 11], and at $x=1$ and $r_{d}=r_{p}: N_{C D n}^{E B T}\left(r_{d}, x\right)=4.3840013 \times 10^{16} \mathrm{~cm}^{-3}$, being higher than that $\left(=4.038 \times 10^{16} \mathrm{~cm}^{-3}\right)$, given in the n-type Ge-crystal [12].

| Donor | P | Si |
| :---: | :---: | :---: |
| $\mathrm{r}_{\mathrm{d}}(\mathrm{nm})$ | 0.110 | $\mathrm{r}_{\mathrm{do}}=0.117$ |
| x | $0, \quad 0.5,1$ | $0, \quad 0.5,1$ |
| $\mathrm{B}_{\mathrm{do}}(\mathrm{x})$ in $10^{2}\left(\mathrm{~N} / \mathrm{m}^{2}\right)$ |  | $9.334069,4.3327235,1.5610697$ |
| $\varepsilon\left(r_{d}, x\right)>$ | 11.58254, 13.81777, 16.052996 | 11.4, 13.6, 15.8 |
| $\mathrm{E}_{\mathrm{gna}}\left(r_{\text {d }}, \mathrm{x}\right) \mathrm{eV}$ / | $1.168778,0.955033,0.7409956$ | 1.17, $0.9556,0.7412$ |
| $\mathrm{N}_{\mathrm{CDn}}\left(\mathrm{r}_{\mathrm{d}}, \mathrm{x}\right)$ in $10^{2 x} \mathrm{~cm}^{-2} /$ | 3.5201424, $0.59776747,0.043840025$ | $3.6919625,0.62694484,0.045979882$ |
| $\mathrm{N}_{\mathrm{CDT}}^{\mathrm{EET}}\left(\mathrm{r}_{\mathrm{s}}, \mathrm{x}\right)$ in $10^{2 \pi} \mathrm{~cm}^{-z}, \gamma$ | $3.5201415,0.59776731,0.043840013$ | $3.6919615,0.62694467,0.045979870$ |
| $\|R D\|_{\text {in }} 10^{-7}$ | $2.69, \quad 2.73,2.65$ | $2.65, \quad 2.67,2.70$ |
| $\mathrm{ran}_{\mathrm{an}}\left(\mathrm{N}_{\mathrm{CD}}\left(\mathrm{r}_{\mathrm{d}}, \mathrm{x}\right), \mathrm{r}_{\mathrm{d}}, \mathrm{x}\right)$ | $2.4852548,2.4852548,2.4852548$ | 2.4852548, $2.4852548,2.4852548$ |
| $x \quad 7$ | $0, \quad 0.5,1$ | $0, \quad 0.5,1$ |
| $\varepsilon\left(r_{2}, \mathrm{X}\right)>$ | $10.165683,12.12748,14.089280$ | $9.6901858,11.56022,13.4302575$ |
| $\mathrm{E}_{\mathrm{gns}}\left(\mathrm{r}_{3}, \mathrm{x}\right) \mathrm{eV}$, | 1.1800687, $0.960274,0.7428839$ | $1.1850114,0.962568,0.7437106$ |
| $\mathrm{N}_{\mathrm{CDn}}\left(\mathrm{r}_{2}, \mathrm{x}\right)$ in $10^{2 x} \mathrm{~cm}^{-z} /$ | $5.2066951,0.88416678,0.064844435$ | 6.0113986, 1.0208163, 0.074866253 |
| $\mathrm{N}_{\mathrm{CDn}}^{\mathrm{EET}}\left(\mathrm{r}_{\mathrm{s}}, \mathrm{x}\right)$ in $10^{25} \mathrm{~cm}^{-2}$ | $5.2066937,0.88416655,0.064844418$ | $6.0113970,1.0208160,0.074866233$ |
| $\|R D\|$ in $10^{-7}$ | $2.65, \quad 2.65,2.66$ | 2.70, $2.89,2.74$ |
| $\mathrm{r}_{\mathrm{an}}\left(\mathrm{N}=\mathrm{N}_{\mathrm{CDR}}^{\mathrm{EET}}, \mathrm{r}_{\mathrm{d}}, \mathrm{x}\right)$ | $2.4852548,2.4852548,2.4852548$ | $2.4852548,2.4852548,2.4852548$ |

Table 1p. The numerical results of $B_{a o}, \varepsilon, E_{\text {gpo }}, N_{C D p}$, and $N_{C D p}^{E B T}$ are computed, using Equations (2), (5), (6), (8), and (26), respectively, noting that the relative deviations in absolute values are defined by: $|R D| \equiv\left|1-\frac{N_{C D P}^{E E T}}{N_{C D P}}\right|$, giving rise to a maximal value of $|R D|_{\text {Max }}\left(=\mathbf{2 . 8 8} \times \mathbf{1 0}^{-\mathbf{7}}\right)$. Here, the value of the effective reduced Wigner-Seitz radius, obtained in Eq. (9a): at $N=N_{C D p}\left(r_{a}, x\right), r_{s n}\left(N_{C D p}\left(r_{a}, x\right), r_{a}, x\right)=2.4852548$. Further, we obtain, at $\mathrm{x}=0$ and $r_{a}=r_{B}: N_{C D p}^{E B T}\left(r_{a}, x\right)=4.0602418 \times 10^{18} \mathrm{~cm}^{-3}$, in good accordance
with that $\left(=4.06 \times 10^{18} \mathrm{~cm}^{-3}\right)$, observed in the p-type Si-crystal [10, 11], and at $x=1$ and $r_{a}=r_{B}: N_{C D p}^{E B T}\left(r_{a}, x\right)=2.6095232 \times 10^{17} \mathrm{~cm}^{-3}$, being higher than that ( $=1.7347 \times 10^{17} \mathrm{~cm}^{-3}$ ), given in the p-type Ge-crystal [12].

| Acceptor | B | Si |
| :---: | :---: | :---: |
| $\mathrm{ra}_{\mathrm{a}}(\mathrm{nm}) \quad$, | 0.088 | $\mathrm{ran}_{20}=0.117$ |
| x 万 | $0, \quad 0.5,1$ | $0, \quad 0.5,1$ |
| $\mathrm{B}_{20}(\mathrm{x})$ in $10^{5}\left(\mathrm{~N} / \mathrm{m}^{2}\right)$ ) |  | 13.50345, 7.377736, 3.902674 |
| $s\left(r_{r}, x\right)>$ | 15.9777, 19.0611, 22.1445 | 11.4, 13.6, 15.8 |
| $\mathrm{E}_{\operatorname{gog}}\left(\mathrm{r}_{2}, \mathrm{x}\right) \mathrm{eV} 7$ | 1.14224, $0.94043,0.73318$ | 1.17, $0.9556,0.7412$ |
| $\mathrm{N}_{\text {CD }}\left(\mathrm{r}_{2}, \mathrm{x}\right)$ in $10^{25} \mathrm{~cm}^{-2}$, | 4.0602429, 1.1243180, 0.26095239 | 11.178374, 3.0953929, 0.71843565 |
| $\mathrm{N}_{\mathrm{CD}}^{\mathrm{EET}}\left(\mathrm{r}_{\nu}, \mathrm{x}\right)$ in $10^{2 x} \mathrm{~cm}^{-z}$, | 4.0602418, 1.1243177, 0.26095232 | 11.178371, 3.0953921, 0.71843546 |
| $\|\mathrm{RD}\|_{\text {in }} 10^{-7}$ | $2.76, \quad 2.47,2.77$ | 2.88, $\quad 2.62,2.64$ |
| $\mathrm{r}_{30}\left(\mathrm{~N}=\mathrm{N}_{\text {CDP }}^{E E T}, \mathrm{r}_{2}, \mathrm{x}\right)$ | 2.4852548, 2.4852548, 2.4852548 | $2.4852548,2.4852548,2.4852548$ |


| x , | $0, \quad 0.5,1$ | $0, \quad 0.5,1$ |
| :---: | :---: | :---: |
| $\varepsilon\left(r_{2}, x\right)>$ | $9.191081,10.9648,12.73851$ | $8.687132,10.36360,12.0401$ |
| $\mathrm{E}_{80}\left(\mathrm{r}_{2}, \mathrm{x}\right) \mathrm{eV}$ T | $1.200448,0.97223,0.749999$ | 1.210834, 0.97791, 0.75300 |
| $\mathrm{N}_{\text {CD }}\left(\mathrm{r}_{2}, \mathrm{x}\right)$ in $10^{2 x} \mathrm{~cm}^{-x} /$ | 21.330127, 5.9065055, 1.3708903 | 25.261773, 6.9952139, 1.6235777 |
| $\mathrm{N}_{\mathrm{CDP}}^{\mathrm{EET}}\left(\mathrm{r}_{\nu}, \mathrm{x}\right)$ in $10^{25} \mathrm{~cm}^{-z}$, | 21.330122, 5.9065040, 1.3708899 | $25.261767,6.9952120,1.6235773$ |
| $\|\mathrm{RD}\|$ in $10^{-7}$ | $2.55, \quad 2.61,2.60$ | $2.55, \quad 2.67,2.55$ |
| $\mathrm{r}_{30}\left(\mathrm{~N}=\mathrm{N}_{\mathrm{CD}}^{\mathrm{EET}}, \mathrm{r}_{\nu}, \mathrm{x}\right)$ | 2.4852548, 2.4852548, 2.4852548 | 2.4852548, $2.4852548,2.4852548$ |

Thus, $\mathrm{N}_{\mathrm{CDn}(\mathrm{NDp})}$, determined in Eq. (8), is just $\mathrm{N}_{\mathrm{CDn}(\mathrm{CDP})}^{\mathrm{EBT}}$, given in Eq. (26), being the density of electrons (holes) localized in the EBT, respectively. This is a new result.
Finally, the effective density of free electrons (holes), $\mathrm{N}^{*}$, given in the parabolic conduction (valence) band of the $n(p)$-type degenerate $\mathrm{Si}_{1-\mathrm{x}} \mathrm{Ge}_{\mathrm{x}}$ - crystalline alloy, can thus be expressed by $\mathrm{N}^{*} \equiv \mathrm{~N}-\mathrm{N}_{\mathrm{CDn}(\mathrm{NDp})} \cong \mathrm{N}-\mathrm{N}_{\mathrm{CDn}(\mathrm{CDp})}^{\mathrm{EBT}}$.

## Optical band gap

Here, the optical band gap (OBG), $\mathrm{E}_{\mathrm{gn} 1\left(\mathrm{Epp}^{1}\right)}\left(\mathrm{N}^{*}, \mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}, \mathrm{T}\right)$, is defined by (Van Cong, 2024; 2023)
$\mathrm{E}_{\mathrm{gn} 1(\mathrm{gp} 1)}\left(\mathrm{N}^{*}, \mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{X}, \mathrm{T}\right) \equiv \mathrm{E}_{\mathrm{gn} 2(\mathrm{gp} 2)}\left(\mathrm{N}^{*}, \mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{X}, \mathrm{T}\right) \pm \mathrm{E}_{\mathrm{Fn}(\mathrm{Fp})}\left(\mathrm{N}^{*}, \mathrm{X}, \mathrm{T}\right)$,
$\mathrm{E}_{\mathrm{gn} 2(\mathrm{gp} 2)}\left(\mathrm{N}^{*}, \mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}, \mathrm{T}\right) \equiv \mathrm{E}_{\mathrm{gno}(\mathrm{gpo})}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a}), \mathrm{x})}-\Delta \mathrm{T}(\mathrm{T})-\Delta \mathrm{E}_{\mathrm{gn}(\mathrm{gp})}\left(\mathrm{N}^{*}, \mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right)\right.$,
where $\mathrm{E}_{\mathrm{gn} 2(\mathrm{gp} 2)}$ is the reduced band gap, meaning that the band gap $\mathrm{E}_{\mathrm{gno}}(\mathrm{gpo})$, given in Equations (5, 6), is reduced by the effect of temperature, $\Delta T(T)$, being given in next Eq. (30), and that of high doping, $\Delta \mathrm{E}_{\mathrm{gn}(\mathrm{sp})}\left(\mathrm{N}^{*}, \mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right)$, being determined in next Equations (31n, 31p), and finally, $\pm \mathrm{E}_{\mathrm{Fn}(\mathrm{Fp})}\left(\mathrm{N}^{*}, \mathrm{X}, \mathrm{T}\right)$ is the Fermi energy, being determined in next Eq. (32). Then, it should be noted that, in the calculation of $\Delta \mathrm{E}_{\mathrm{gn}(\mathrm{sp})}$ and $\mathrm{E}_{\mathrm{Fn}(\mathrm{Fp})}$, the effective mass $\mathrm{m}_{\mathrm{c}(\mathrm{v})}(\mathrm{x})$ is now replaced by the reduced mass $\mathrm{m}_{\mathrm{r}}(\mathrm{x})$. Further, the reduced effective Wigner-Seitz radius, $\mathrm{r}_{\mathrm{sn}(\mathrm{sp})}$, characteristic of interactions, determined in Eq. (9a), and the Fermi wave number, $\mathrm{k}_{\mathrm{Fn}(\mathrm{FP})}$, are now replaced by:


Here, in the $n(p)$-type degenerate $X(x) \equiv\left[\mathrm{Si}_{1-\mathrm{x}}\left(\mathrm{Ge}_{\mathrm{x}}\right)\right]$ crystalline alloy, $0 \leq \mathrm{x} \leq 1$, the effective average number of equivalent conduction (valence)-band edges is determined by $g_{c}(x)=4 \times x+6 \times(1-x), g_{v}(x)=2 \times x+2 \times(1-x)$.

Now, the expressions of $\Delta \mathrm{T}, \Delta \mathrm{E}_{\mathrm{gn}(\mathrm{gp})}$ and $\pm \mathrm{E}_{\mathrm{Fn}(\mathrm{Fp})}$ are determined in the following.

## $\Delta \mathbf{T}(\mathbf{T})$-Determination

Here, we have
$\Delta \mathrm{T}(\mathrm{T})=10^{-4} \times \mathrm{T}^{2} \times\left[\frac{3.525 \times \mathrm{x}}{\mathrm{T}+94 \mathrm{~K}}+\frac{2.54 \times(1-\mathrm{x})}{\mathrm{T}+204 \mathrm{~K}}\right]$.

## $\Delta \mathrm{E}_{\mathrm{gn}(\mathrm{gp})}\left(\mathrm{N}^{*}, \mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right)$-Determination

Then, the band gap narrowing $\Delta \mathrm{E}_{\mathrm{gn}}\left(\mathrm{N}^{*}, \mathrm{x}, \mathrm{T}\right)$ is found to be given by
$\Delta \mathrm{E}_{\mathrm{gn}}\left(\mathrm{N}^{*}{ }^{*} \mathrm{r}_{\mathrm{d}}, \mathrm{x}\right) \simeq \mathrm{a}_{1} \times \frac{\mathrm{r}_{2}(x)}{2\left(\mathrm{r}_{\mathrm{d}} \times 1\right)} \times \mathrm{N}_{\mathrm{r}}^{1 / 3}+\mathrm{a}_{2} \times \frac{\mathrm{r}_{\mathrm{o}}(x)}{2\left(\mathrm{r}_{\mathrm{d}} \mathrm{d}\right)} \times \mathrm{N}_{\mathrm{r}}^{\frac{1}{8}} \times\left(2.503 \times\left[-\mathrm{E}_{\mathrm{cn}}\left(\mathrm{r}_{\mathrm{gn}}\right) \times \mathrm{r}_{\mathrm{sn}}\right]\right)+\mathrm{a}_{3} \times$
$\left[\frac{s_{5}(x)}{\varepsilon\left(r_{d} x\right)}\right]^{5 / 4} \times \sqrt{\frac{m_{\mathrm{V}}}{m_{\mathrm{r}}}} \times \mathrm{N}_{\mathrm{r}}^{1 / 4}+\mathrm{a}_{4} \times \sqrt{\frac{\varepsilon_{0}(x)}{\varepsilon\left(\mathrm{r}_{d} x\right)}} \times \mathrm{N}_{\mathrm{r}}^{1 / 2} \times 2+\mathrm{a}_{5} \times\left[\frac{\varepsilon_{5}(x)}{\varepsilon\left(r_{d} x\right)}\right]^{\frac{8}{2}} \times \mathrm{N}_{\mathrm{r}}^{\frac{1}{6}}$
$\mathrm{N}_{\mathrm{r}} \equiv\left(\frac{\mathrm{N}^{*}}{\mathrm{~N}_{\mathrm{CDn}}}\right)$,
where $a_{1}=4.492098 \times 10^{-3}(\mathrm{eV}), a_{2}=7.6875582 \times 10^{-4}(\mathrm{eV}), a_{3}=3.3114218 \times 10^{-3}(\mathrm{eV})$, $a_{4}=6.64704 \times 10^{-3}(\mathrm{eV})$ and $\mathrm{a}_{5}=9.5796678 \times 10^{-4}(\mathrm{eV})$, and

$\sqrt{\frac{m_{\varepsilon}}{m_{r}}} \times N_{r}^{1 / 4}+2 \mathrm{a}_{4} \times \sqrt{\frac{z_{0}(x)}{2\left(r_{r} x\right)}} \times \mathrm{N}_{\mathrm{r}}^{1 / 2}+\mathrm{a}_{5} \times\left[\frac{\varepsilon_{0}(x)}{\left.2\left(r_{2} x\right)\right)^{\frac{3}{2}}} \times \mathrm{N}_{\mathrm{r}}^{\frac{1}{6}}\right.$
$\mathrm{N}_{\mathrm{r}} \equiv\left(\frac{\mathrm{N}^{*}}{\mathrm{~N}_{\mathrm{CDP}}}\right)$,
where $\quad a_{1}=0.0183654(\mathrm{eV}) \quad, \quad a_{2}=3.14145 \times 10^{-3}(\mathrm{eV}) \quad, \quad a_{3}=0.014064(\mathrm{eV}) \quad$, $a_{4}=0.0270503(\mathrm{eV})$ and $\mathrm{a}_{5}=3.91473 \times 10^{-3}(\mathrm{eV})$.
Further, the correlation energy of an effective electron gas, $\mathrm{E}_{\mathrm{cn}(\mathrm{cp})}\left(\mathrm{N}^{*}, \mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right)$, is given as:

and $\mathrm{r}_{\mathrm{sn}(\mathrm{sp})}$ is determined in Eq. (29).
It should be noted in Equations (31n) and (31p) that, for given $\mathrm{r}_{\mathrm{d}(\mathrm{a})}$ and x , the values of $\Delta \mathrm{E}_{\mathrm{gn}(\mathrm{g})}$ increase with increasing N .

## $\pm \mathrm{E}_{\mathrm{Fn}(\mathrm{Fp})}\left(\mathrm{N}^{*}, \mathrm{x}, \mathrm{T}\right)$-Determination

Here, as given in our previous work, ${ }^{[8]}$ for the $\mathrm{n}(\mathrm{p})$-type, the Fermi energy $\pm \mathrm{E}_{\mathrm{Fn}(\mathrm{Fp})}$ was investigated, with a precision of the order of $2.11 \times 10^{-4}$, as:
$\frac{\mathrm{Ern}^{(u)}}{\mathrm{kBT}_{\mathrm{T}}}\left(\frac{-\mathrm{E}_{\mathrm{pp}}(\mathrm{u})}{\mathrm{k}_{\mathrm{B}} \mathrm{T}}\right)=\frac{\mathrm{C}(\mathrm{u})+\mathrm{Au}^{\mathrm{E}} \mathrm{F}(\mathrm{u})}{1+\mathrm{Au}^{\mathrm{B}}}, \mathrm{A}=0.0005372$ and $\mathrm{B}=4.82842262$,
where $u$ is the reduced electron density, $u\left(N^{*}, T, x\right) \equiv \frac{N^{*}}{N_{c[(y)}(T, x]} \quad$,

$\mathrm{a}=[(3 \sqrt{\pi} / 4) \times \mathrm{u}]^{2 / 3}, \quad \mathrm{~b}=\frac{1}{8}\left(\frac{\pi}{2}\right)^{2}, \mathrm{c}=\frac{62.3799855}{1992}\left(\frac{\pi}{2}\right)^{4}, \quad$ and $\quad \mathrm{G}(\mathrm{u}) \simeq \operatorname{Ln}(\mathrm{u})+2^{-\frac{\mathrm{x}}{2}} \times \mathrm{u} \times \mathrm{e}^{-\mathrm{du}}$; $\mathrm{d}=2^{3 / 2}\left[\frac{1}{\sqrt{27}}-\frac{\pi}{16}\right]>0$.

Here, one notes that
(i) as $u \gg 1$, according to the degenerate case, Eq. (32) is reduced to the function $\mathrm{F}(\mathrm{u})$,
(ii) $\frac{\mathrm{E}_{\mathrm{Fr}}(\mathrm{u} \ll 1)}{\mathrm{kgT}}\left(\frac{-\mathrm{E}_{\mathrm{Fp}}(\mathrm{u} \ll 1)}{\mathrm{kB}_{\mathrm{B}}}\right) \ll-1$, to the non-degenerate case, Eq. (32) is reduced to the function $G(u)$, and for given $r_{d(a)}$ and $x$, the values of $\pm \mathrm{E}_{\mathrm{Fn}(\mathrm{Fp})}$ increase with increasing $\mathrm{N}^{*}$. Now, going back to Eq. (28),
(1)-the numerical results of $\mathrm{E}_{\mathrm{gn} 1(\mathrm{gp} 1)}\left(\mathrm{N}^{*}, \mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}=0, \mathrm{~T}=20 \mathrm{~K}\right)$ are calculated, being in good agreement with experimental ones obtained by Wagner and del Alamo (1988), with maximal relative deviations: $5.38 \%(9.07 \%)$, and $2.06 \%(5.16 \%)$, as observed in the following Tables 2 n and 2 p in Appendix 1.

## Tables 2n and 2p in Appendix 1

(2)-for $\mathrm{N}>\mathrm{N}_{\mathrm{CDn}\left(\mathrm{CDp}_{\mathrm{p}}\right)}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right)$, the numerical results of the OBG, given in the $\mathrm{n}(\mathrm{p})$-type, $\mathrm{E}_{\mathrm{gn} 1}\left(\mathrm{~N}^{*}, \mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{X}, \mathrm{T}=20 \mathrm{~K}\right)$, are obtained, using Eq. (28), as functions of N and $\mathrm{r}_{\mathrm{d}(\mathrm{a})}$, for $\mathrm{x}=0$, $0.5,1$, respectively, being reported in following Tables 3 n and 3 p in Appendix 1.

Table 2n. Here, the numerical results of the optical band gap, given in the $n(p)$-type, $E_{g n 1}\left({ }^{*}{ }^{*}, r_{d}=r_{p}, x=0, T\right)$, expressed in $e V$, are obtained by using Eq. (28), respectively, noting that the maximal values of $\left|\mathbf{R D}=\mathbf{1}-\underset{\substack{\mathrm{E}_{\mathrm{gmp}} \\ \mathrm{E}_{\mathrm{gnn}}}}{ }\right|, \mathrm{E}_{\mathrm{En} 1}^{\mathrm{Exp} .}$ being the experimental values given by Wagner and del Alamo (1988), are found to be given respectively, at $\mathrm{T}=20 \mathrm{~K}$ and $\mathrm{T}=300$ K, by: 5.38 \% ( $9.07 \%$ ).

| N in $10^{25} \mathrm{~cm}^{-2}$ | 4 | 8.5 | 15 | 50 | 80 | 150 |
| :---: | :---: | :---: | :---: | :---: | :---: | :---: |
| $E_{g^{n 1}}^{E_{p 1}}\left(N^{*}, r_{p}, 20 K\right)$ | 1.138 | 1.133 | 1.129 | 1.131 | 1.132 | 1.133 |
| $E_{g^{n} 1}\left(N^{*}, r_{p}, x=0,20 \mathrm{~K}\right)$ | 1.161 | 1.158 | 1.157 | 1.165 | 1.174 | 1.194 |
| $\|\mathrm{RD}\|_{\text {in \% }}$ | 2.07 | 2.21 | 2.52 | 3.04 | 3.70 | 5.38 |
| N in $10^{25} \mathrm{~cm}^{-z}$ | 4 | 8.5 | 15 | 50 | 80 | 150 |
| $\mathrm{E}_{\mathrm{g}^{\mathrm{n} 2}}^{\mathrm{Exp}}\left(\mathrm{~N}^{*}, r_{p}, 300 \mathrm{~K}\right)$ | 1.020 | 1.028 | 1.033 | 1.050 | 1.056 | 1.059 |
| $\mathrm{E}_{\mathrm{gn} 2}\left(\mathrm{~N}^{*}, r_{p p} \mathrm{x}=0,300 \mathrm{~K}\right)$ | 1.024 | 1.071 | 1.085 | 1.113 | 1.131 | 1.155 |
| $\|\mathrm{RD}\|$ in \% | 0.48 | 4.24 | 5.10 | 5.97 | 7.15 | 9.07 |

Table 2p. Here, the numerical results of the optical band gap, given in the $\mathrm{n}(\mathrm{p})$-type, $\mathrm{E}_{\mathrm{gp} 1}\left(\mathrm{~N}^{*}, \mathrm{r}_{\mathrm{a}}=\mathrm{r}_{\mathrm{B}}, \mathrm{x}=0, \mathrm{~T}\right)$, expressed in eV , are obtained by using Eq. (28), respectively, noting that the maximal values of $\left|\mathbf{R D}=\mathbf{1}-\frac{\mathrm{E}_{\mathrm{gp}}}{\mathrm{E}_{\mathrm{gpi}}^{\mathrm{Ep}},}\right|, \mathrm{E}_{\mathrm{Ep} 1}^{\mathrm{Exp} 1}$ being the experimental values given by Wagner and del Alamo (1988), are found to be given respectively, at $\mathrm{T}=20 \mathrm{~K}$ and $\mathrm{T}=300$ K, by: 2.06 \% ( $5.16 \%$ ).

| N in $10^{25} \mathrm{~cm}^{-z}$ | 6.5 | 11 | 15 | 26 | 60 | 170 | 400 |
| :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: |
| $E_{k 01}^{E \times p}\left(N^{*}, r_{B}, 20 \mathrm{~K}\right)$ | 1.142 | 1.140 | 1.139 | 1.142 | 1.142 | 1.162 | 1.178 |
| $\mathrm{E}_{80}\left(\mathrm{~N}^{*}, \mathrm{r}_{\mathrm{E}}, \mathrm{x}=0,20 \mathrm{~K}\right)$ | 1.156 | 1.142 | 1.136 | 1.127 | 1.121 | 1.138 | 1.202 |
| $\|\mathrm{RD}\|_{\text {in \% }}$ | 1.26 | 0.23 | 0.23 | 1.29 | 1.87 | 2.05 | 2.06 |
| N in $10^{2 x} \mathrm{~cm}^{-z}$ | 6.5 | 11 | 15 | 26 | 60 | 170 | 400 |
| $E_{E 02}^{E_{x p}}\left(N^{*}, r_{\mathrm{E}}, 300 \mathrm{~K}\right) \mathrm{V}$ | 1.036 | 1.044 | 1.048 | 1.051 | 1.062 | 1.086 | 1.102 |
| $\mathrm{E}_{801}\left(\mathrm{~N}^{*}, \mathrm{r}_{\mathrm{B}}, \mathrm{x}=0,300 \mathrm{~K}\right)$ | 1.077 | 1.079 | 1.078 | 1.081 | 1.081 | 1.095 | 1.158 |
| $\|\mathrm{RD}\|$ in \% | 3.96 | 3.38 | 2.92 | 2.91 | 1.81 | 0.91 | 5.16 |

## Tables 3n and 3p in Appendix 1

Finally, in this degenerate $X(x)$ - crystalline alloy, as noted in Equations (31n), (31p) and (32), because both two functions: $\Delta \mathrm{E}_{\mathrm{gn}(\mathrm{gp})}$ and $\pm \mathrm{E}_{\mathrm{Fn}(\mathrm{Fp})}$, for given $\mathrm{r}_{\mathrm{d}(\mathrm{a})}$ and x , increase with increasing $\mathrm{N}^{*}, \mathrm{E}_{\mathrm{gm} 1}\left(\mathrm{~N}^{*}, \mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}, \mathrm{T}=20 \mathrm{~K}\right)$, determined in Eq. (28), and expressed as functions of $\mathbf{N}^{*}$, thus randomly varies.

Table 3n. Here, for $N>N_{\mathrm{CDn}_{n}}\left(\mathrm{r}_{\mathrm{d}}, \mathrm{x}\right)$, the numerical results of the optical band gap, $\mathrm{E}_{\mathrm{gn} 1}\left(\mathrm{~N}^{*}, \mathrm{r}_{\mathrm{d}}, \mathrm{x}, \mathrm{T}=20 \mathrm{~K}\right)$, are obtained by using Eq. (28), as functions of N and $\mathrm{r}_{\mathrm{d}}$, for $\mathrm{x}=0$, $0.5,1$, respectively. Here, for given N and $\mathrm{r}_{\mathrm{d}}, \mathrm{E}_{\mathrm{gn} 1}$ decreases with increasing x , since $\mathrm{E}_{\text {gno }}\left(\mathrm{r}_{\mathrm{d}}, \mathrm{x}\right)$ decreases, as observed in Table 1n.

| N in $10^{25} \mathrm{~cm}^{-2}$ | 4 | 8.5 | 15 | 50 | 80 | 150 |
| :---: | :---: | :---: | :---: | :---: | :---: | :---: |
| $\mathrm{x}=0$ |  |  |  |  |  |  |
| $E_{g n 1}\left(N^{*}, r_{p p}, x, T\right)$ in $e V$ | 1.161 | 1.158 | 1.157 | 1.165 | 1.174 | 1.194 |
| $\mathrm{E}_{\mathrm{gn} 2}\left(\mathrm{~N}^{*}, \mathrm{r}_{5,} \mathrm{x}, \mathrm{T}\right)$ in eV | 1.161 | 1.157 | 1.156 | 1.164 | 1.173 | 1.194 |
| $\mathrm{E}_{\mathrm{gn} 1}\left(\mathrm{~N}^{*}, \mathrm{r}_{5 b}, \mathrm{x}, \mathrm{T}\right)$ in eV |  | 1.169 | 1.168 | 1.179 | 1.189 | 1.211 |
| $\mathrm{E}_{\mathrm{gn} 2}\left(\mathrm{~N}^{*}, \mathrm{r}_{5 n}, \mathrm{x}, \mathrm{T}\right)$ in eV |  | 1.174 | 1.173 | 1.185 | 1.195 | 1.219 |
| $\mathrm{x}=0.5$ |  |  |  |  |  |  |
| $E_{g n 1}\left(N^{*}, r_{p}, x, T\right)$ in $e V$ | 0.924 | 0.917 | 0.911 | 0.905 | 0.908 | 0.920 |
| $\mathrm{E}_{\mathrm{gn} 2}\left(\mathrm{~N}^{*}, \mathrm{r}_{5 j} \mathrm{x}, \mathrm{T}\right)$ in eV | 0.924 | 0.917 | 0.912 | 0.906 | 0.909 | 0.923 |
| $E_{g n 2}\left(N^{*}, r_{s b}, x, T\right)$ in $e V$ | 0.932 | 0.926 | 0.922 | 0.923 | 0.929 | 0.948 |
| $E_{g_{n 1}}\left(N^{*}, r_{S_{n}}, x, T\right)$ in $e V$ | 0.936 | 0.930 | 0.927 | 0.929 | 0.937 | 0.958 |
| $\mathrm{x}=1$ |  |  |  |  |  |  |
| $\mathrm{E}_{\mathrm{gn}^{1}}\left(\mathrm{~N}^{*}, r_{p,}, \mathrm{x}, \mathrm{T}\right)$ in eV | 0.616 | 0.576 | 0.539 | 0.438 | 0.392 | 0.327 |
| $E_{g^{n} 2}\left(N^{*}, r_{s j}, x, T\right)$ in $e V$ | 0.617 | 0.578 | 0.542 | 0.445 | 0.400 | 0.339 |
| $E_{g n 2}\left(N^{*}, r_{s b}, x, T\right)$ in $e V$ | 0.631 | 0.598 | 0.568 | 0.491 | 0.459 | 0.419 |
| $E_{g n 1}\left(N^{*}, r_{S m}, x, T\right)$ in $e V$ | 0.637 | 0.605 | 0.578 | 0.509 | 0.482 | 0.450 |

Table 3p. Here, for $N>N_{C D_{p}}\left(r_{a}, x\right)$, the numerical results of $E_{g p 1}\left(N^{*}, r_{a}, x, T=20 K\right)$, are obtained by using Eq. (28), as functions of N and $\mathrm{r}_{\mathrm{a}}$, for $\mathrm{x}=0,0.5,1$, respectively. Here, for given $N$ and $r_{a}, E_{g p 1}$ decreases with increasing $x$, since $E_{g p o}\left(r_{a}, x\right)$ decreases, as observed in Table 1p.

| N in $10^{15} \mathrm{~cm}^{-2}$ | 6.5 | 11 | 15 | 26 | 60 | 170 | 400 |
| :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: |
| $\mathrm{x}=0$ |  |  |  |  |  |  |  |
| $E_{g 0^{1}}\left(N^{*}, r_{B}, T\right)$ in eV | 1.156 | 1.142 | 1.136 | 1.127 | 1.121 | 1.138 | 1.202 |
| $\mathrm{E}_{80^{1}}\left(\mathrm{~N}^{*}, \mathrm{r}_{5 i}, \mathrm{~T}\right)$ in eV |  |  | 1.132 | 1.125 | 1.133 | 1.183 | 1.291 |
| $\mathrm{E}_{801}\left(\mathrm{~N}^{*}, \mathrm{r}_{1 \mathrm{n}}, \mathrm{T}\right)$ in eV |  |  |  | 1.165 | 1.175 | 1.241 | 1.371 |
| $\mathrm{E}_{80^{1}}\left(\mathrm{~N}^{*}, \mathrm{r}_{\mathrm{Cd}}, \mathrm{T}\right)$ in eV |  |  |  | 1.186 | 1.186 | 1.256 | 1.391 |

$\mathrm{x}=0.5$

| $\mathrm{E}_{801}\left(\mathrm{~N}^{*}, \mathrm{r}_{\mathrm{E}}, \mathrm{T}\right)$ in eV | 0.872 | 0.851 | 0.838 | 0.814 | 0.777 | 0.744 | 0.759 |
| :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: |
| $\mathrm{E}_{801}\left(\mathrm{~N}^{*}, \mathrm{r}_{5 i}, \mathrm{~T}\right)$ in eV | 0.889 | 0.874 | 0.866 | 0.855 | 0.848 | 0.879 | 0.977 |
| $\mathrm{E}_{60^{1}}\left(\mathrm{~N}^{*}, \mathrm{r}_{1 \mathrm{n}}, \mathrm{T}\right)$ in eV | 0.935 | 0.909 | 0.901 | 0.896 | 0.903 | 0.963 | 1.102 |
| $\mathrm{E}_{60^{1}}\left(\mathrm{~N}^{*}, \mathrm{r}_{\mathrm{Cd}}, \mathrm{T}\right)$ in eV |  | 0.919 | 0.912 | 0.906 | 0.916 | 0.983 | 1.131 |
| $\mathrm{x}=1$ |  |  |  |  |  |  |  |
| $\mathrm{E}_{801}\left(\mathrm{~N}^{*}, \mathrm{r}_{\mathrm{E}}, \mathrm{T}\right)$ in eV | 0.549 | 0.507 | 0.480 | 0.427 | 0.336 | 0.227 | 0.185 |
| $\mathrm{E}_{801}\left(\mathrm{~N}^{*}, \mathrm{r}_{5 i}, \mathrm{~T}\right)$ in eV | 0.601 | 0.578 | 0.564 | 0.541 | 0.516 | 0.539 | 0.673 |
| $\mathrm{E}_{801}\left(\mathrm{~N}^{*}, \mathrm{r}_{1 \mathrm{n}}, \mathrm{T}\right)$ in eV | 0.638 | 0.622 | 0.615 | 0.605 | 0.612 | 0.699 | 0.916 |
| $\mathrm{E}_{801}\left(\mathrm{~N}^{*}, \mathrm{r}_{\mathrm{Cd}}, \mathrm{T}\right)$ in eV | 0.647 | 0.633 | 0.627 | 0.621 | 0.634 | 0.735 | 0.971 |

## CONCLUSION

In those Tables, some concluding remarks are given and discussed in the following.
(1)-For a given $x$, while $\varepsilon\left(r_{d(a)}, x\right)$ decreases $(\searrow)$, the functions: $E_{\mathrm{gno}(\mathrm{gpo})}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right)$, $\mathrm{N}_{\mathrm{CDn}\left(\mathrm{CDP}_{p}\right)}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right)$ and $\mathrm{N}_{\mathrm{CDn}\left(\mathrm{CDp}_{\mathrm{p}}\right)}^{\mathrm{EBP}}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right)$ increase $(\nearrow)$, with increasing $(\nearrow) \mathrm{r}_{\mathrm{d}(\mathrm{a})}$, due to the impurity size effect, as observed in Tables 1 n and 1 p in Appendix 1.
(2)-Further, for a given $r_{d(a)}$, while $\varepsilon\left(r_{d(a)}, x\right)$ also decreases $(\searrow)$, the functions: $\mathrm{E}_{\mathrm{gno}(\mathrm{gpo})}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right), \mathrm{N}_{\mathrm{CDn}\left(\mathrm{CDp}_{\mathrm{p}}\right)}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right)$ and $\mathrm{N}_{\mathrm{CDn}(\mathrm{CDp})}^{\mathrm{EBT}}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right)$ also increase $(\nearrow)$, with increasing $(\boldsymbol{\gamma}) \mathrm{x}$, as observed in Tables 1 n and 1 p in Appendix 1.
(3)- In those Tables 1 n and 1 p , one also notes that the maximal value of $\| \mathrm{RD} \mid$ is found to be given by: $2.89 \times 10^{-7}$, meaning that $\mathrm{N}_{\mathrm{CDn}\left(\mathrm{CD}_{\mathrm{p})}\right)} \cong \mathrm{N}_{\mathrm{CDn}(\mathrm{CDP})}$. In other words, such the critical $\mathrm{d}(\mathrm{a})$-density $\left.\mathrm{N}_{\mathrm{CDn}\left(\mathrm{NDp}_{\mathrm{p}}\right)}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}\right), \mathrm{x}\right)$, is just the density of electrons (holes), localized in the EBT, $N_{C D n(C D p)}^{\mathrm{EBR}}\left(\mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right)$, respectively.
(4) Finally, once $\mathrm{N}_{\mathrm{CDn}\left(\mathrm{CDP}_{p}\right)}$ is determined, the effective density of free electrons (holes), $\mathrm{N}^{*}$, given in the parabolic conduction (valence) band of the $n(p)$-type degenerate $X(x)$ - crystalline alloy, can thus be defined, as those defined in the compensated crystals, by:
$\mathrm{N}^{*}\left(\mathrm{~N}, \mathrm{r}_{\mathrm{d}(\mathrm{a})}, \mathrm{x}\right) \equiv \mathrm{N}-\mathrm{N}_{\mathrm{CDn}(\mathrm{NDP})} \cong \mathrm{N}-\mathrm{N}_{\mathrm{CDn}}^{\mathrm{EBT}(\mathrm{CDp})}$,

Needing to determine the optical, electrical, and thermoelectric properties in such $n(p)$-type degenerate $\mathrm{X}(\mathrm{x})$-crystalline alloys, as those studied in $\mathrm{n}(\mathrm{p})$-type degenerate crystals [3-12].

## REFERENCES

1. H. Van Cong, "Critical Impurity Densities in Metal-Insulator Transition, Obtained in $\mathrm{n}(\mathrm{p})$-Type Degenerate $\left[\mathrm{InSb}_{1-\mathrm{x}} \mathrm{P}_{\mathrm{x}}\left(\mathrm{As}_{\mathrm{x}}\right)\right.$, $\left.\mathrm{GaSb}_{1-\mathrm{x}} \mathrm{P}_{\mathrm{x}}\left(\mathrm{As}_{\mathrm{x}}\right), \mathrm{CdSe}_{1-\mathrm{x}} \mathrm{S}_{\mathrm{x}}\left(\mathrm{Te}_{\mathrm{x}}\right)\right]$-Crystalline Alloys, and Explained by That of Carriers Localized in Exponential Band Tails. (III)", World Journal of Engineering Research and Technology, 2024; 10(4): 191-220.
2. H. Van Cong, "Critical Impurity Densities in the Mott Metal-Insulator Transition, Obtained in Three $\mathrm{n}(\mathrm{p})$-Type Degenerate $\mathrm{Si}_{1-\mathrm{x}} \mathrm{Ge}_{\mathrm{z}}$-Crystalline Alloy and its applications", European Journal of Theoretical and Applied Sciences, 2024; 2(2): 130-148.
3. H. Van Cong, "Effects of donor size and heavy doping on optical, electrical and thermoelectric properties of various degenerate donor-silicon systems at low temperatures," American Journal of Modern Physics, 2018; 7: 136-165.
4. "Accurate expressions for optical coefficients, due to the impurity-size effect, and obtained in $\mathrm{n}(\mathrm{p})$-type degenerate Si crystals, taking into account their correct asymptotic behavior, as the photon energy E $(\rightarrow \infty)$," SCIREA J. Phys., 2023; 8: 172-197.
5. M.A. Green et al., "Solar cell efficiency tables (version 60)", Prog. Photovolt. Res. \& Appl., 2022; 30: 687-701.
6. C. Kittel, "Introduction to Solid State Physics", Wiley, New York, 1976; 84-100.
7. S. Moon et al., "Highly efficient single GaAs thin-film solar cell on flexible substrate", Sci. Rep., 2016; 6: 30107.
8. H. Van Cong et al., "Optical bandgap in various impurity-Si systems from the metalinsulator transition study", Physica B, 2014; 436: 130-139.
9. H. Van Cong \& G. Debiais, "A simple accurate expression of the reduced Fermi energy for any reduced carrier density", J. Appl. Phys., 1993; 73: 1545-1546.
10. H. Van Cong et al., "Size effect on different impurity levels in semiconductors", Solid State Communications, 1984; 49: 697-699.
11. H. Van Cong et al., "Optical bandgap in various impurity-Si systems from the metalinsulator transition study," Physica B, 2014; 436: 130-139. H. Stupp et al., Phys. Rev. Lett., 1993; 71: 2634. P. Dai et al., Phys. Rev. B, 1992; 45: 3984.
12. H. Van Cong, "Accurate expressions for optical coefficients, given in n(p)-type degenerate Ge-crystals, due to the impurity-size effect, and obtained from an improved Forouhi-Bloomer parameterization model," SCIREA J. Phys., 2023; 8: 255-279.
13. J. Wagner and J. A. del Alamo, J. Appl. Phys., 1988; 63: 425-429.

## Appendix 1

Table 1: The numerical results of $\mathrm{E}_{\mathrm{dn}}, \varepsilon, \mathrm{E}_{\mathrm{gnn}}, \mathrm{N}_{\mathrm{CDn}}$, and $\mathbb{N}_{\mathrm{CD}}^{\mathrm{EET}}$ are computed, using Equations (2), (5), (6), (8), and (26),
 maximal value of $\|\mathrm{RD}\|_{\mathrm{Nax}}\left(=2.89 \times 10^{-\tau}\right)$. Here, the value of the effective reduced Wigner-Seitz radius, obtained in Eq. (9a): at $N=N_{\operatorname{con}}\left(r_{d}, x\right), r_{z n}\left(N_{\operatorname{cDn}}\left(r_{d}, x\right)_{,} r_{d}, x\right)=$ 2.4852548. Further, we obtain, at $x=0$ and $r_{d}=r_{p}: N_{\operatorname{CBT}}^{E E T}\left(r_{d}, x\right)$ $=3.5201415 \times 10^{2 x} \mathrm{~cm}^{-x}$, in good accordance with that $\left(=3.52 \times 10^{2 x} \mathrm{~cm}^{-x}\right)$, observed in the n -type Si-crystal [10, 11], and at $x=1$ and $r_{d}=r_{p}: \mathbb{N}_{\operatorname{EPT}}^{\operatorname{EET}}\left(r_{b}, x\right)=4,3840013 \times 10^{18} \mathrm{~cm}^{-x}$, being higher than that $\left(=4,038 \times 10^{28} \mathrm{~cm}^{-x}\right)$, given in the $n-$ type Ge-crystal. ${ }^{[12]}$

| Donor | P | Si |
| :---: | :---: | :---: |
| $\mathrm{rad}_{\mathrm{d}}(\mathrm{nm}) \quad \overline{ }$ | 0.110 | $\mathrm{r}_{\text {do }}=0.117$ |
| $x$ x | $0, \quad 0.5,1$ | $0, \quad 0.5,1$ |
| $\mathrm{Bda}_{\mathrm{dr}}(\mathrm{x})$ in $10^{\mathrm{x}}\left(\mathrm{N} / \mathrm{m}^{2}\right)>$ |  | $9.334069,4.3327235,1.5610697$ |
| $\mathrm{s}\left(\mathrm{r}_{6}, \mathrm{x}\right)>$ | 11.58254, 13.81777, 16.052996 | 11.4, 13.6, 15.8 |
| $E_{\text {gna }}\left(r_{d}, \mathrm{x}\right) \mathrm{eV}$ ] | 1.168778, $0.955033,0.7409956$ | 1.17, $0.9556,0.7412$ |
| $\mathrm{N}_{\mathrm{cDn}}\left(\mathrm{r}_{3}, \mathrm{x}\right)$ in $10^{2 \mathrm{x}} \mathrm{cm}^{-x} 7$ | 3.5201424, 0.59776747, 0.043840025 | 3.6919625, 0.62694484, 0.045979882 |
| $N_{C D N}^{\operatorname{EET}}\left(r_{0}, \mathrm{x}\right)$ in $10^{2 x} \mathrm{~cm}^{-x}$, | 3.5201415, 0.59776731, 0.043840013 | 3.6919615, 0.62694467, 0.045979870 |
| $\mid \mathrm{RD}]_{\text {in }} 10^{-8}$ | $2.69, \quad 2.73,2.65$ | $2.65, \quad 2.67,2.70$ |
| $\mathrm{ran}_{\mathrm{an}}\left(\mathrm{N}_{\operatorname{con}}\left(\mathrm{r}_{\mathrm{d}}, \mathrm{X}\right) \mathrm{r}_{\mathrm{d}}, \mathrm{x}\right)$ | 2.4852548, 2.4852548, 2.4852548 | 2.4852548, 2.4852548, 2.4852548 |
| Donor | Sb | Sn |
| $\mathrm{r}_{\mathrm{d}}(\mathrm{nm}) \quad \bar{T}$ | 0.136 | 0.140 |
| $x$ x | $0, \quad 0.5,1$ | $0, \quad 0.5,1$ |
| $\varepsilon\left(r_{*}, \mathrm{x}\right)>$ | 10.165683, 12.12748, 14.089280 | 9.6901858, 11.56022, 13.4302575 |
| $E_{\text {gna }}\left(r_{r}, \mathrm{x}\right) \mathrm{eV}$ \% | 1.1800687, 0.960274, 0.7428839 | $1.1850114,0.962568,0.7437106$ |
| $\mathrm{N}_{\mathrm{cpn}}\left(\mathrm{r}_{d}, \mathrm{x}\right)$ in $10^{2 x} \mathrm{~cm}^{-x} 7$ | 5.2066951, 0.88416678, 0.064844435 | $6.0113986,1.0208163,0.074866253$ |
| $\mathrm{N}_{\operatorname{CRT}}^{\operatorname{EET}}\left(\mathrm{r}_{0}, \mathrm{x}\right)$ in $10^{2 x} \mathrm{~cm}^{-x}$, | 5.2066937, $0.88416655,0.064844418$ | $6.0113970,1.0208160,0.074866233$ |
| [ RD$]_{\text {in }} 10^{-8}$ | $2.65, \quad 2.65,2.66$ | $2.70, \quad \mathbf{2 . 8 9 ,} 2.74$ |
|  | 2.4852548, 2.4852548, 2.4852548 | 2.4852548, 2.4852548, 2.4852548 |

 respectively, noting that the relative deviations in absolute values are defined by: $|\mathrm{RD}| \equiv\left|1-\frac{\mathrm{NEDF}}{\mathbb{N}_{\mathrm{cs}}}\right|$, giving rise to a maximal value of $\mid \mathrm{RD} \|_{\text {Scx }}\left(=2.88 \times 10^{-\top}\right)$. Here, the value of the effective reduced Wigner-Seitz radius, obtained in Eq.
 $=4,0602418 \times 10^{2 x} \mathrm{~cm}^{-x}$, in good accordance with that $\left(=4,06 \times 10^{2 x} \mathrm{~cm}^{-2}\right)$, observed in the p-type Si-crystal [10, 11], and at $x=1$ and $r_{s}=r_{\mathrm{E}}: \mathbb{N}_{\mathbb{C D}}^{\operatorname{EET}}\left(\mathrm{r}_{v}, \mathrm{x}\right)=2.6095232 \times 10^{27} \mathrm{~cm}^{-2}$, being higher than that $\left(=1.7347 \times 10^{27} \mathrm{~cm}^{-x}\right)$, given in the $p-$ type Ge-crystal. ${ }^{[12]}$

| Acceptor | B | Si |
| :---: | :---: | :---: |
| $\mathrm{rag}_{\mathrm{a}}(\mathrm{nm}) \quad \bar{\gamma}$ | 0.088 | $\mathrm{ran}_{30}=\mathbf{0 . 1 1 7}$ |
| $x$ x | $0, \quad 0.5,1$ | $0, \quad 0.5,1$ |
| $\mathrm{E}_{x z}(\mathrm{x})$ in $10^{\mathrm{x}}\left(\mathrm{N} / \mathrm{m}^{3}\right)>$ |  | 13.50345, 7.377736, 3.902674 |
| $\mathrm{E}\left(\mathrm{rax}_{\mathrm{p}} \mathrm{x}\right)>$ | 15.9777, 19.0611, 22.1445 | 11.4, 13.6, 15.8 |


| $\mathbb{E}_{\operatorname{gxp}}\left(\mathrm{r}_{s}, \mathrm{x}\right) \mathrm{eV} 7$ | 1.14224, 0.94043, 0.73318 | 1.17, 0.9556, 0.7412 |
| :---: | :---: | :---: |
| $\mathrm{N}_{\mathrm{CD}_{\mathrm{D}}}\left(\mathrm{r}_{n}, \mathrm{x}\right)$ in $10^{1 \mathrm{x}} \mathrm{cm}^{-x} \eta$ | 4.0602429, 1.1243180, 0.26095239 | 11.178374, 3.0953929, 0.71843565 |
|  | 4.0602418, 1.1243177, 0.26095232 | $11.178371,3.0953921,0.71843546$ |
| $\mid \mathrm{RD}]_{\text {in }} 10^{-7}$ | 2.76, 2.47, 2.77 | 2.88, 2.62, 2.64 |
|  | 2.4852548, $2.4852548,2.4852548$ | 2.4852548, 2.4852548, 2.4852548 |
| Acceptor | In | Cd |
| $\mathrm{r}_{\mathrm{a}}(\mathrm{nm}) \quad \Rightarrow$ | 0.144 | 0.148 |
| x 7 | $0, \quad 0.5,1$ | $0, \quad 0.5,1$ |
| $\mathrm{g}\left(\mathrm{r}_{2}, \mathrm{x}\right)>$ | 9.191081, 10.9648, 12.73851 | 8.687132, 10.36360, 12.0401 |
| $\mathrm{E}_{\operatorname{gzp}}\left(\mathrm{r}_{\sim}, \mathrm{x}\right) \mathrm{eV} 7$ | 1.200448, 0.97223, 0.749999 | 1.210834, 0.97791, 0.75300 |
| $\mathrm{N}_{\mathrm{CD}_{p}}\left(\mathrm{r}_{v}, \mathrm{x}\right)$ in $10^{2 x} \mathrm{~cm}^{-x} 7$ | 21.330127, 5.9065055, 1.3708903 | 25.261773, 6.9952139, 1.6235777 |
|  | 21.330122, 5.9065040, 1.3708899 | 25.261767, 6.9952120, 1.6235773 |
| $\mid \mathrm{RD}]_{\text {in }} 10^{-7}$ | $2.55, \quad 2.61,2.60$ | 2.55, $2.67,2.55$ |
|  | 2.4852548, 2.4852548, 2.4852548 | 2.4852548, 2.4852548, 2.4852548 |

Table 2: Here, the numerical results of the optical band gap, given in the n(p)-type, $E_{g n 2}\left(N_{a} r_{d}=r_{p, x}=0, T\right)$, expressed in $e V$, are obtained by using Eq. (28), respectively, noting that the maximal values
 respectively, at $\mathbf{T}=\mathbf{2 0} \mathrm{K}$ and $\mathrm{T}=\mathbf{3 0 0} \mathrm{K}$, by: $5.38 \%(9.07 \%)$.

| N in $10^{2 x} \mathrm{~cm}^{-x}$ | 4 | 8.5 | 15 | 50 | 80 | 150 |  |
| :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: |
| $\mathrm{E}_{\mathrm{gran}}^{\mathrm{Erp}}\left(\mathrm{N}^{*}, \mathrm{r}_{\mathrm{p}}, 20 \mathrm{~K}\right)$ | 1.138 | 1.133 | 1.129 | 1.131 |  | 1.132 | 1.133 |
| $\mathrm{E}_{\mathrm{gn} 2}\left(\mathrm{~N}^{*}, \mathrm{r}_{\mathrm{p}}, \mathrm{x}=0,20 \mathrm{~K}\right)$ | 1.161 | 1.158 | 1.157 | 1.165 |  | 1.174 | 1.194 |
| $\|\mathrm{RD}\|$ in \% | 2.07 | 2.21 | 2.52 | 3.04 |  | 3.70 | 5.38 |
| N in $10^{2 x} \mathrm{~cm}^{-x}$ | 4 | 8.5 | 15 | 50 | 80 | 150 |  |
| $\mathrm{E}_{\mathrm{E}^{\mathrm{nm}} \mathrm{L}}^{\mathrm{Er}}\left(\mathrm{N}_{2}, \mathrm{r}_{\mathrm{p}}, 300 \mathrm{~K}\right)$ | 1.020 | 1.028 | 1.033 | 1.050 |  | 1.056 | 1.059 |
| $\mathrm{E}_{\mathrm{gn}}\left(\mathrm{N}^{*}, \mathrm{r}_{\mathrm{p}, \mathrm{x}}=0,300 \mathrm{~K}\right)$ | 1.024 | 1.071 | 1.085 | 1.113 |  | 1.131 | 1.155 |
| $\mid R D]$ in \% | 0.48 | 4.24 | 5.10 | 5.97 |  | 7.159 .07 |  |

Table 2p: Here, the numerical results of the optical band gap, given in the n(p)-type, $E_{g D^{2}}\left(N_{s}^{*} r_{x}=r_{B}, x=0, T\right)$, expressed in $e V$, are obtained by using Eq. (28), respectively, noting that the maximal values
 respectively, at $\mathrm{T}=\mathbf{2 0} \mathrm{K}$ and $\mathrm{T}=300 \mathrm{~K}$, by: $2.06 \%(5.16 \%)$.


| $\mid R D]$ in \% | 1.26 | 0.23 | 0.23 | 1.29 | 1.87 | 2.05 | 2.06 |
| :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: |
| N in $10^{28} \mathrm{~cm}^{-2}$ | 6.5 | 11 | 15 | 26 | 60 | 170 | 400 |
| $\mathrm{E}_{\mathrm{EP}^{2}}^{\mathrm{Exp}}\left(\mathrm{N} ; \mathrm{r}_{\mathrm{E}}, 300 \mathrm{~K}\right] \mathrm{V}$ | 1.036 | 1.044 | 1.048 | 1.051 | 1.062 | 1.086 | 1.102 |
| $\mathrm{E}_{\mathrm{gaz}}\left(\mathrm{N}_{2} \mathrm{r}_{\mathrm{E},} \mathrm{X}=0,300 \mathrm{~K}\right)$ | 1.077 | 1.079 | 1.078 | 1.081 | 1.081 | 1.095 | 1.158 |
| $\mid \mathrm{RD}]$ in \% | 3.96 | 3.38 | 2.92 | 2.91 | 1.81 | 0.91 | 5.16 |

Table 3n: Here, for $N>N_{c D n}\left(r_{d,} x\right)$, the numerical results of the optical band gap, $E_{g n 2}\left(N_{i} r_{d, 3} T=20 K\right)$, are obtained by using Eq. (28), as functions of $N$ and $r_{d}$, for $x=0,0.5,1$, respectively. Here, for given $N$ and $r_{d}, E_{g n i}$ decreases with increasing $x$, since $E_{g m s}\left(r_{s}, x\right)$ decreases, as observed in Table 1n.

| N in $10^{25} \mathrm{~cm}^{-2}$ | 4 | 8.5 | 15 | $50 \quad 80$ | 150 |  |
| :---: | :---: | :---: | :---: | :---: | :---: | :---: |
| $\mathrm{x}=0$ |  |  |  |  |  |  |
| $E_{g n 2}\left(N^{*}, r_{p}, x_{1} T\right)$ in eV | 1.161 | 1.158 | 1.157 | 1.165 | 1.174 | 1.194 |
| $\mathrm{E}_{8 \mathrm{n} 2}\left(\mathrm{~N}_{2}, \mathrm{r}_{52}, \mathrm{X}_{6} \mathrm{~T}\right)$ in eV | 1.161 | 1.157 | 1.156 | 1.164 | 1.173 | 1.194 |
|  |  | 1.169 | 1.168 | 1.179 | 1.189 | 1.211 |
| $\mathrm{E}_{\mathrm{gn} 2}\left(\mathrm{~N}^{*}, \mathrm{r}_{5 \times 2} \mathrm{Xr}_{6} \mathrm{~T}\right)$ in eV |  | 1.174 | 1.173 | 1.185 | 1.195 | 1.219 |


| $\mathrm{E}_{g^{n} 2}\left(\mathrm{~N}_{0}^{*} \mathrm{r}_{p}, \mathrm{r}_{6} \mathrm{~T}\right)$ in eV | 0.924 | 0.917 | 0.911 | 0.905 | 0.908 | 0.920 |
| :---: | :---: | :---: | :---: | :---: | :---: | :---: |
| $\mathrm{E}_{8 \mathrm{ml}}\left(\mathrm{N}^{*}, \mathrm{r}_{52}, \mathrm{x}_{1} \mathrm{~T}\right)$ in eV | 0.924 | 0.917 | 0.912 | 0.906 | 0.909 | 0.923 |
|  | 0.932 | 0.926 | 0.922 | 0.923 | 0.929 | 0.948 |
| $\mathrm{E}_{\mathrm{gn} 2}\left(\mathrm{~N}^{*}, \mathrm{r}_{\mathrm{Sm}} \mathrm{XN}_{4} \mathrm{~T}\right)$ in eV | 0.936 | 0.930 | 0.927 | 0.929 | 0.937 | 0.958 |
| $\mathrm{X}=1$ |  |  |  |  |  |  |
| $\mathrm{E}_{\mathrm{gn2}}\left(\mathrm{~N}^{*} \mathrm{r}_{\mathrm{p}}, \mathrm{x}_{6} \mathrm{~T}\right)$ in eV | 0.616 | 0.576 | 0.539 | 0.438 | 0.392 | 0.327 |
| $\mathrm{E}_{\mathrm{gn} 2}\left(\mathrm{~N}_{2}, \mathrm{r}_{52}, \mathrm{x}_{6} \mathrm{~T}\right)$ in eV | 0.617 | 0.578 | 0.542 | 0.445 | 0.400 | 0.339 |
| $E_{g n 2}\left(N^{*}, \mathrm{r}_{56} \mathrm{X}_{6} \mathrm{~T}\right)$ in eV | 0.631 | 0.598 | 0.568 | 0.491 | 0.459 | 0.419 |
| $\mathrm{E}_{\mathrm{gn} 2}\left(\mathrm{~N}^{*} \mathrm{r}_{5 \times 2} \mathrm{X}_{6} \mathrm{~T}\right)$ in eV | 0.637 | 0.605 | 0.578 | 0.509 | 0.482 | 0.450 |

Table 3p: Here, for $N>N_{C D_{p}}\left(r_{v}, x\right)$, the numerical results of $E_{g p^{2}}\left(N_{z}{ }_{z} r_{v}, x_{v} T=20 \mathrm{~K}\right)$, are obtained by using Eq. (28), as functions of $N$ and $r_{x}$, for $x=0,0.5,1$, respectively. Here, for given $N$ and $r_{x}, E_{k=1}$ decreases with increasing $x$, since $E_{g m o}\left(r_{v}, x\right)$ decreases, as observed in Table 1p.

| N in $10^{2 x} \mathrm{~cm}^{-2}$ | 6.5 | 11 | 15 | 26 | 60 | 170 | 400 |
| :--- | :--- | :--- | :--- | :--- | :--- | :--- | :--- |
| $\mathrm{x}=0$ |  |  |  |  |  |  |  |


| $\mathbb{E}_{\mathrm{ga} 2}\left(\mathrm{~N}_{2}, \mathrm{r}_{\mathrm{E}}, \mathrm{T}\right)$ in eV | 1.156 |  | 1.142 | 1.136 |  | 1.127 |  | 1.121 | 1.138 | 1.202 |
| :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: |
| $\mathrm{E}_{8 \mathrm{~g}^{2}}\left(\mathrm{~N}^{*} \mathrm{r}_{52,} \mathrm{~T}\right)$ in eV |  |  | 1.132 |  | 1.125 |  | 1.133 | 1.183 | 1.291 |  |
|  |  |  |  | 1.165 |  | 1.175 | 1.241 | 1.371 |  |  |
|  |  |  |  | 1.186 |  | 1.186 | 1.256 | 1.391 |  |  |
| $\mathrm{x}=0.5$ |  |  |  |  |  |  |  |  |  |  |
| $E_{g r a^{2}}\left(N^{*}, r_{E}, T\right)$ in eV | 0.872 |  | 0.851 | 0.838 | 0.814 |  | 0.777 | 0.744 | 0.759 |  |
| $\mathrm{E}_{5 \times 2}\left(\mathrm{~N}^{*} \mathrm{r}_{50}, \mathrm{~T}\right)$ in eV | 0.889 |  | 0.874 | 0.866 | 0.855 |  | 0.848 | 0.879 | 0.977 |  |
| $\mathrm{Egran}^{2}\left(\mathrm{~N}_{2} \mathrm{r}_{\mathrm{In}} \mathrm{T}^{2}\right)$ in eV | 0.935 |  | 0.909 | 0.901 | 0.896 |  | 0.903 | 0.963 | 1.102 |  |
| $\mathrm{E}_{\mathrm{ga}^{2}}\left(\mathrm{~N}^{*}, \mathrm{r}_{\mathrm{Cd}}, \mathrm{T}\right)$ in eV |  | 0.919 | 0.912 | 0.906 |  | 0.916 | 0.983 | 1.131 |  |  |
| $\mathrm{x}=1$ |  |  |  |  |  |  |  |  |  |  |
| $\mathbb{E}_{\mathrm{ga} 2}\left(\mathrm{~N}_{2}, \mathrm{r}_{\mathrm{E}}, \mathrm{T}\right)$ in eV | 0.549 |  | 0.507 | 0.480 | 0.427 |  | 0.336 | 0.227 | 0.185 |  |
| $\mathrm{Egan}^{2}\left(\mathrm{~N}_{2} \mathrm{r}_{52}, \mathrm{~T}\right)$ in eV | 0.601 |  | 0.578 | 0.564 | 0.541 |  | 0.516 | 0.539 | 0.673 |  |
|  | 0.638 |  | 0.622 | 0.615 | 0.605 |  | 0.612 | 0.699 | 0.916 |  |
| $\mathrm{Ega2}^{2}\left(\mathrm{~N}_{2} \mathrm{r}_{\text {cas }} \mathrm{T}\right)$ ) in eV | 0.647 |  | 0.633 | 0.627 | 0.621 |  | 0.634 | 0.735 | 0.971 |  |

